Elsevier required licence: © 2021
This manuscript version is made available under the CC-BY-NC-ND 4.0 license
http://creativecommons.org/licenses/by-nc-nd/4.0/
The definitive publisher version is available online at
https://doi.org/10.1016/j.cej.2021.129425

## Polyaniline-based adsorbents for aqueous pollutants removal: A review

Akbar Samadi ${ }^{\text {a }}$, Ming Xie ${ }^{\text {b }}$, Jingliang Li ${ }^{\text {a }}$, Hokyong Shon ${ }^{\text {c }}$, Chunmiao Zheng ${ }^{\text {d,d }}$, Shuaifei Zhao ${ }^{\text {a, * }}$<br>${ }^{a}$ Deakin University, Geelong, Institute for Frontier Materials, VIC 3216, Australia<br>${ }^{b}$ Department of Chemical Engineering, University of Bath, BA2 7AY, UK<br>${ }^{c}$ School of Civil and Environmental Engineering, University of Technology Sydney, NSW 2007, Australia<br>${ }^{d}$ Guangdong Provincial Key Laboratory of Soil and Groundwater Pollution Control, Southern University of Science and Technology, Shenzhen, China<br>${ }^{d}$ SUSTech Environmental, Inc., Longgang District, Shenzhen, China<br>* Corresponding author: Shuaifei Zhao, Email: s.zhao@deakin.edu.au; Phone: +61-3-5227 3779.


#### Abstract

Water contamination by a variety of pollutants, such as conventional pollutants (e.g. heavy metals and organics) and emerging micropollutants (e.g. personal care products and endocrine disrupting compounds) is of great concern. Various technologies have been developed to address this critical challenge. Among them, adsorption by polyaniline (PANI)-based nanocomposites, has gained growing research interest recently due to their unique electrical characteristics and many other benefits, such as facile synthesis, low cost, excellent environmental stability, simple acid-base doping/dedoping process, reactive NH- groups, and tunable properties. This paper provides a comprehensive review of the typical PANI-based adsorbents and their properties. Moreover, the removal of various aqueous contaminants (including heavy metals and metalloids, organic dyes, and emerging pollutants) by PANI-based adsorbents is discussed and assessed. The unique doping/dedoping of PANI-based adsorbents alters the morphology, pore size, surface charge, and functional groups of the adsorbents, leading to enhanced adsorbent-adsorbate interactions and thus adsorption performance. The adsorption mechanisms of aqueous pollutants by PANI-based adsorbents include electrostatic interactions, van der Waals forces, $\pi-\pi$ interactions, hydrogen bonding, chelating and/or


complexation effects. The kinetic studies by pseudo-first order, pseudo-second order, Elovich, and intraparticle diffusion models and regeneration of PANI-based adsorbents are also discussed. Finally, the future outlooks on aqueous pollutants removal by PANI-based adsorbents are presented.

Keywords: polyaniline; water treatment; heavy metal removal; organic dyes; emerging pollutants.

## 1. Introduction

### 1.1. Water contamination and adsorption

Freshwater is of vital importance for humans as it drives not only all lives but also all activities of these lives. Although more than $70 \%$ of the Earth's surface is covered by oceans and seas, only $0.8 \%$ of the Earth's water is considered as fresh water [1]. Nowadays over 1 billion people have little access to clean drinking water and approximately 2.3 billion people live in water-stressed regions [2]. Various organic and inorganic pollutants, such as heavy metals, dyes, humic substances, phenolic compounds, pesticides, herbicides, pharmaceuticals, per- and polyfluoroalkyl substances (PFASs), and polychlorinated biphenyls (PCBs) cause severe water contamination, which worsens water scarcity and shortages $[3,4]$.

A variety of technologies, such as adsorption, membrane filtration, photo-remediation, and ion exchange have been developed to remove pollutants from water [5, 6]. Adsorption is one of the most cost-effective and promising methods because of its low cost, insensitivity to toxic pollutants, simplicity, and flexibility in design and operation [7]. The past decades have witnessed emerging research activities to develop numerous materials for adsorption of aqueous pollutants [8]. The most common adsorbents for the removal of aqueous
pollutants are illustrated in Fig. 1. Various adsorbents, such as activated carbon, natural zeolites, alumina, biochar, and clay minerals have been used for the removal of aqueous pollutants. However, their applications are limited by some challenges, such as the low adsorption capacities, high costs and regeneration issues [7].

Thus, growing research interest has been shifted towards low-cost and efficient adsorbents with facile regeneration. Recently, conducting polymers, such as polyaniline (PANI) and polypyrrole (PPy) have attracted increasing attention for aqueous pollutants removal because of their simple synthesis procedures, tunable morphologies and versatile functional groups [8]. This review details and evaluates PANI and its composites due to their low costs, ease of synthesis, excellent environmental stabilities, and unique doping/dedoping properties [8].


Fig. 1. Summary of common adsorbents for the removal of aqueous pollutants, modified from [9].

### 1.2. Polyaniline (PANI)-based nanocomposites for water and wastewater treatment

Polymers are a class of new materials for adsorption because of their high surface areas, adjustable surface chemistry, excellent mechanical rigidity, desirable pore size distribution, and economical regeneration under mild conditions [10]. Polyaniline (PANI), a conducting polymer, has been extensively studied as a promising adsorbent for aqueous pollutants removal due to its unique electrical characteristics, facile synthesis, low costs of monomers, excellent environmental stability, effortlessly-controlled reversible properties (e.g. by charge exchange doping and protonation), unique functional groups (e.g. NH-), and tunable properties [11-15]. In addition, PANI-based nanocomposites have also been widely studied for adsorption of pollutants, due to their high surface areas, excellent dispersibility, and synergistic properties of the polymer and the filler $[8,15,16]$. Another advantage of PANI-based nanocomposites is their diverse morphological structures, which are adjustable and predictable by key synthesis parameters, such as the dopant type, pH , contact time, temperature, adsorbent dosage, concentration, nature of the adsorbent, and the presence of competing ions. Consequently, PANI-based nanocomposites with various nanostructures have been fabricated for aqueous pollutants removal (e.g. heavy metals and dyes) $[8,11,14]$.

Increasing interest in PANI-based nanocomposites for the removal of aqueous pollutants in the past two decades is illustrated in Fig. 2A. Fig. 2B shows the contributions from different countries/regions on the investigation of PANI-based adsorbents. A number of reviews have been published and covered different aspects of the treatment of aqueous pollutants, such as heavy metals [10, 16-21], dyes [10, 15, 17, 18], and emerging pollutants [22-24] by various nanostructured adsorbents, such as conductive polymers [5, 10], claybased adsorbents [25], biodegradable polymers [10, 18, 26], graphene nanosheets [22], and carbon nanotubes [27]. However, few reviews focusing on PANI-based nano-adsorbents for aqueous pollutants removal have
been published so far.


Fig. 2. (A) Growing research interest in PANI-based adsorbents for pollutants removal. The data are obtained from Google Scholar using "polyaniline" or "PANI" as the keyword for searching. (B) Contributions from different countries/regions on the investigation of PANI-based adsorbents.

This comprehensive review focuses on the removal of aqueous pollutants from water and wastewater. Moreover, the variety of PANI polymer and its derivatives, PANI copolymers, and PANI-based nanocomposites with organic and inorganic materials are discussed for the treatment of a diversity of pollutants. The removal of various pollutants is discussed in three main categories of (I) heavy metals and metalloids, (II) organic dyes, and (III) emerging pollutants. Furthermore, the adsorption mechanisms and driving forces for the removal of pollutants are discussed for each type of adsorbent as well as for each category of the pollutants.

## 2. Types for polyaniline-based adsorbents

### 2.1. Polyaniline (PANI)

Various properties of PANI, such as mechanical, electrical, optical, physical, thermal, chemical, and morphological properties have been investigated in many applications [28-32]. For PANI-based adsorbents, the most studied properties are the surface area, surface charge, hydrophobicity, morphology, and functional groups. PANI, a representative from the family of conducting polymers, is distinguished by easy synthesis and high environmental stability [33]. The unique features of PANI are related to its highly ordered chemical structure. Chemically, PANI consists of " $n$ " reduced benzenoid diamine and " $m$ " oxidized quinoid diamine repeating units, where the oxidation state of PANI depends on the value of " $m$ ". PANI exists in three oxidation states: leucoemeraldine, pernigraniline, and emeraldine having $m: n$ ratio as $0: 1,1: 1$, and $1: 0$, respectively with different conductivities and electric charges (Fig. 3A) [13-15, 34, 35]. Predominately imine groups but also the amine groups in PANI chains can be further protonated in the presence of $\mathrm{H}^{+}$(acidic) ion or the dopant to generate the cationic defects that are the main reason for the reversible conductivity of PANI [34]. The unprotonated and protonated forms of PANI are known as base and salt, respectively (Fig. 3B). Emeraldine is
the most stable form of PANI, containing an equal number of the oxidized and reduced units $[11,13,15,35]$.
(A)


## II-Chain Propagation



(B)


Fig. 3. (A) Reaction mechanism of aniline polymerization through chemical oxidation: $x=0,0.5$, and 1 representing the leucoemeraldine, emeraldine, and pernigraniline forms of PANI, respectively. (B) Different redox forms of PANI with its doped states.

The different tuneable properties of PANI make it a suitable candidate for various applications. Leucoemeraldine is a fully reduced state. Pernigraniline is the fully oxidized state with imine links instead of amine links. Emeraldine base is a neutral form of PANI which can be doped by an acid to produce protonated nitrogen atoms of imine groups. Emeraldine base is regarded as the most useful form of PANI due to its high stability at room temperature and its doped form (emeraldine salt) is electrically conducting. These forms may be inter-converted by chemical and/or electrochemical oxidation or reduction [34]. PANI is a prospective candidate adsorbent for wastewater treatment owing to active amine and imine groups as adsorption sites
interacting with pollutants in aqueous solutions [36]. As shown in Fig. 4, the morphology of PANI is of research interest because of its diverse and tailorable shapes (e.g. nanotube [12], nanofiber [37], nanoflake [38], and nanopowder [39]), pore sizes, pore size distributions, and free volumes [38].


Fig. 4. SEM/TEM images of PANI (a) nanofiber [40], (b) nanotube [41], (c) nanoflake [39], (d) nanoparticle [42], (e) flower-petal [43], (f) nanowire [44], (g) nano-cable [45], (h) nano-needle [46] , (i) nano-belt [47], (j) nano-rod [48], (k) nanostick [49].

### 2.2. PANI-based adsorbents

PANI and its derivatives have been widely used in various applications due to their unique characteristics, such as facile synthesis, excellent electrical conductivity, low costs, and good environmental stability $[10,15$, 50]. Compared with PANI, its derivatives such as Poly(ortho-phenylenediamine) (PoPDA) have similar chemical structures but different pendant functional groups. PANI and its derivatives have been used as
adsorbents for the removal of various pollutants from drinking water and wastewater due to their large amounts of amine and imine functional groups. PANI derivatives have good solubility in common organic solvents, and they have more functionality but have poor conductivity in comparison with PANI [10]. The forms of pernigraniline and emeraldine exist in either salts or bases. Emeraldine is regarded as the most stable and most useful form of PANI, consisting of equal number of oxidized and reduced units. Imine group of emeraldine base becomes polycationic when doped or protonated with acids. Emeraldine base is widely used as an adsorbent while pernigraniline and its salts can decompose in air because of quinonediimine fragment which is unstable in the presence of a nucleophile, specifically water [15]. To overcome the issues of PANI, enhance its mechanical property/recovery or create synergistic adsorption, PANI has been hybridized with different materials (e.g. clays, carbon nanotubes, and graphene). These PANI-based adsorbents are generally synthesized by in-situ polymerization of aniline. Various PANI-based adsorbents combining different features of the fillers and their key advantages are summarized in Fig. 5.


Fig. 5. Diverse types of PANI-based adsorbents with different fillers and their key advantages.

### 2.3. Synthesis and characterization of PANI-based adsorbents

PANI can be synthesized by chemical oxidation [51] or electrochemical oxidation [52] polymerization of aniline. PANI is more often synthesized by chemical oxidative polymerization of the aniline via free radical initiators, such as ammonium peroxydisulfate, potassium persulfate, ferric chloride, potassium dichromate, and chloroaurate as oxidants [13, 53-57]. Typical chemical polymerization routes for the synthesis of PANI and PANI-based adsorbents are depicted in Fig. 6. Chemical polymerization of aniline via oxidation includes three main steps: initiation, chain propagation and termination with a radical-dominant mechanism (Fig. 3A) [8,58]. Electrochemical polymerization can be realized by employing one of the three techniques: (1) applying a constant current (galvanostatic), (2) applying a constant potential (potentiostatic), or (3) applying a potential scanning/cycling to the aqueous solution of aniline [7, 15]. Electrochemical polymerization is typically performed in a strongly acidic aqueous electrolyte by a radical polymerization mechanism, thereby forming anilinium radical cations by aniline oxidation on the electrode [8]. The main approach for the synthesis of PANI-based adsorbents is in-situ polymerization in the presence of organic/inorganic fillers (Fig. 6B), leading to enhanced distribution of the filler and low agglomeration of PANI molecules [55, 59-68].


Fig. 6. Preparation of (A) PANI and (B) PANI-based adsorbents by chemical polymerization of aniline.

The morphology of PANI is of great interest because of its diverse and tailorable shapes (e.g. nanotube [12], nanofiber [37], nanoflake [38], and nanopowder [39]), pore sizes, pore size distributions, and free volumes [38]. Compared with a single adsorbent, the PANI composite adsorbent often has enhanced adsorption capability, likely due to the increased surface area and pore volumes of the composite [11]. Samadi et al. synthesized PANI/clay nanocomposites with flower-petal morphology through in-situ polymerization of aniline in the presence of organophilic clay (Cloisite 30B). Study of the chemical structure and morphology of PANI/clay nanopowder by Fourier-transform infrared spectroscopy (FTIR), X-ray powder diffraction (XRD), and scanning electron microscope (SEM) showed exfoliation of the silicate layers throughout the

PANI matrix [69].

FTIR results provide information about specific functional groups, existence of any impurities or remained solvents. Xu et al determined amounts of the remaining camphor sulfonic acid in the synthesized polyaniline nanotubes by relating the bands at 1037 and $501 \mathrm{~cm}^{-1}$ to the absorption of $-\mathrm{S}_{3} \mathrm{OH}$ groups from camphor sulfonic acid [13]. FTIR data before and after adsorption also give evidence on adsorption. The adsorption band at $1240 \mathrm{~cm}^{-1}$ corresponding to the C-F with higher intensity after adsorbing perfluorooctanoate (PFOA) and perflourooctane sulfonate (PFOS), suggesting their adsorption by the PANI nanotubes [13]. Shifts in the wavenumber of the peak also give some clues on the possible interactions between the adsorbent and the filler. X-ray photoelectron spectroscopy (XPS) spectra, in combination with FTIR, provide useful information on the adsorption of various substances on the surface of the adsorbent. The variation of the detected functional groups and the charge of metal ions play an important role in the adsorption mechanism [70].

Surface areas and pore volumes are important factors for the adsorption capacities of PANI-based adsorbents and they are generally measured by $\mathrm{N}_{2}$ adsorption-desorption using Brunauer-Emmett-Teller (BET) analysis. Incorporation of fillers in the PANI matrix or penetration of PANI into 2D and 3D structures of the fillers often leads to increased surface areas of the adsorbents and thus enhanced adsorption capacities [71-75]. For example, Liu et al. prepared PANI/emulsion microsphere composites for adsorption of methyl orange and found that the modification of PANI with mono-dispersed poly(styrene-methyl methacrylate-acrylic acid) microspheres increased the surface area of PANI from 22.8 to $41.7 \mathrm{~m}^{2} / \mathrm{g}$ and also the adsorption capacity from 140 to $155 \mathrm{mg} / \mathrm{g}$ [76]. In another work, Dutta et al. prepared nanofibers of PANI hollow microsphere $/ \mathrm{Fe}_{3} \mathrm{O}_{4}$ nanocomposite with a surface area of $64 \mathrm{~m}^{2} / \mathrm{g}$, which was higher than PANI and conventional PANI/ $\mathrm{Fe}_{3} \mathrm{O}_{4}$ composite [74]. Some examples of PANI-based adsorbents with enhanced surface areas are presented in Table 1.

Table 1. BET surface areas and pore volumes of PANI-based adsorbents.

| Adsorbents | Surface area $\left(\mathrm{m}^{2} / \mathrm{g}\right)$ | Pore volume $\left(\mathrm{cm}^{3} / \mathrm{g}\right)$ | Pore diameter (nm) | Pollutants | References |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{CuFe}_{2} \mathrm{O}_{4} / \mathrm{PANI}$ | 30.8 | 0.06 | 17.8 | Hg (II) | [71] |
| PANI/clay | 26.32 | 0.12 | 17.55 | Acid Green 25 | [72] |
| PANI | 18.28 | 0.07 | 15.63 |  |  |
| PANI/PSMA | 41.7 | - | - | methyl orange | [76] |
| PANI | 22.8 | - | - |  |  |
| GO/ $\mathrm{SiO}_{2} @$ PANI | 150.36 | 0.07 | 9.32 | $\mathrm{Cu}(\mathrm{II}), \mathrm{Cr}(\mathrm{VI})$ | [73] |
| $\mathrm{PNHM} / \mathrm{Fe}_{3} \mathrm{O}_{4}$ | 64 | 0.16 | 10.3 | As(III) | [74] |
| PANI/Clay | 182.11 | 1.6 | 3.8 | Cu (II) | [75] |
| PANI nanofiber | 48.83 | - | - | methyl orange | [77] |
| PANI | 13.65 | - | - |  |  |
| $\mathrm{PANI} / \mathrm{Fe}_{3} \mathrm{O}_{4}$ | 99.8 | 0.06 | 3 | Basic Blue 3 | [11] |
| PANI | 46.7 | 0.02 | 3 |  |  |
| PANI/BiVO ${ }_{4}$ | 23.53 | - | - | methyl orange | [78] |
| PANI | 9.14 | - | - |  |  |

PSMA: poly(styrene-methyl methacrylate-acrylic acid); PNHM: PANI hollow microsphere.

## 3. Typical aqueous pollutants removed by polyaniline-based adsorbents

PANI-based adsorbents have been applied for the removal of a wide variety of aqueous pollutants. These pollutants can be primarily categorized into: (1) (inorganic) heavy metals and metalloids, (2) (organic) dyes, and (3) emerging pollutants. This section outlines the This section outlines the pollutants and their removal by PANI-based adsorbents.

### 3.1. Heavy metals and metalloids

Heavy metals (e.g. arsenic, copper, zinc, nickel, cadmium, chromium, mercury, and lead) generated from various industries, such as mining, metal plating, tanneries, batteries, fertilizers, and pesticides, can cause detrimental environmental problems and health issues. Although conventional adsorbents, such as silica, clay minerals, and zeolites have been used for the removal of heavy metals, they face the issues of high costs and/or low efficiency during the the treatment and disposal of the residual metal sludge [79]. Polymer
nanocomposites are promising adsorbents for the removal of metal ions due to their intrinsic dimensionality, and textural and chemical properties (e.g. surface area, pore-volume, and pore diameter). In particular, PANIbased adsorbents are excellent candidates, as PANI has highly reactive adsorption sites (-NH) with enhanced adsorptive properties. Furthermore, PANI has amphoteric carbonaceous surface groups that can be easily protonated (positively charged) or deprotonated (negatively charged) depending on the solution pH . Chelating groups, such as sulfur, oxygen, and phosphorus can also be added to PANI to chemically interact with charged metal ions [79].

PANI-based adsorbents, including PANI, PANI derivatives, and PANI composites with other materials, have been widely employed for the removal of various heavy metals and metalloids (Table 2), such as $\mathrm{Cr}(\mathrm{VI})$ [80], $\mathrm{Hg}(\mathrm{II})$ [81], $\mathrm{Cu}(\mathrm{II})$ [73, 82], $\mathrm{Cd}(\mathrm{II})$ [83], $\mathrm{As}(\mathrm{III})$ [74], $\mathrm{Pb}(\mathrm{II})$ [84], and $\mathrm{Zn}(\mathrm{II})$ [85]. Unique chemical nature, surface area, morphology, and diverse functional groups are the most important properties of these adsorbents which often have excellent adsorption capacities for heavy metals and metalloids. Fig. 7 shows the different morphologies of the synthesized PANI derivatives based on phenylenediamine (i.e., PoPDA, PpPDA: poly(para- phenylenediamine), and PmPDA: poly(meta- phenylenediamine)) [10]. The morphology and chemical structure of the adsorbent significantly affect the adsorption capacity. For instance, the maximum $\mathrm{Pb}(\mathrm{II})$ adsorption on the PANI derivatives is in the order of: PpPDA microspheres > PmPDA microparticles $>$ PoPDA hollow microspheres [10].


Fig. 7. SEM images of the PoPDA hollow microspheres (A, B and C) and PpPDA microstructures (G, $H$ and I) and TEM images of the PmPDA microstructures (D, E and F) synthesized by different methods [10].

During the adsorption of heavy metal ions by PANI-based adsorbents, metal ions form complexes with the oxygen-, nitrogen-, sulfur-, or phosphorus-containing groups of the incorporated ligands, which act as chelating agents and provide a negative residual charge to the surface of the composites [79]. The chelating mechanism is affected by various parameters, such as pH , ionic strength, number of functional groups, and
the presence of natural organic matters. The competitive adsorption between electrolytes and metal ions can be altered by ionic strength via affecting the electric double layer of hydrated particles, thereby changing the way of metal ions binding with the chelating groups. In addition, low pH is desirable for adsorption of lead, zinc, cadmium, and chromium ions since they would precipitate at high pH values. The removal of metal anions, such as $\mathrm{Cr}(\mathrm{VI})$ by PANI-based adsorbents is more efficient at lower pH levels because of the stronger electrostatic attraction between aqueous $\mathrm{Cr}(\mathrm{VI})$ oxyanions and protonated imine groups [16]. A schematic representation of the adsorption of metal ions by PANI-based adsorbents and the possible adsorption mechanisms are illustrated in Fig. 8.
(1) Electrostatic interactions

(2) Anion exchange

(4) Chelation



Fig. 8. Proposed mechanisms of metal ions removal by PANI-based adsorbents using $\mathrm{Cr}(\mathrm{VI})$ as an example, including several steps: (1) electrostatic interactions between the negatively charged aqueous $\mathrm{Cr}(\mathrm{VI})$ oxyanions and protonated imine groups, or (2) ion exchange between doped aqueous $\mathrm{Cr}(\mathrm{VI})$ oxyanions and anion (e.g. $\mathrm{Cl}^{-}$) doped in PANI. Step (1) or (2) leads to $\mathrm{Cr}(\mathrm{VI})$ adsorption onto the PANI surface. (3) Some $\mathrm{Cr}(\mathrm{VI})$ oxyanions are reduced into $\mathrm{Cr}(\mathrm{III})$ cations while amines are oxidized into quinoid amine. (4) The oxidized quinoid amines of PANI are bound with partial $\mathrm{Cr}(\mathrm{III})$ cations.

The variation of the functional groups of the adsorbents and the charge of metal ions play an important role in
the adsorption mechanism [70]. Generally, electrostatic interaction, participation, reduction, complexation, and ion-exchange are the main mechanisms of metal ion adsorption by PANI-based adsorbents. Kumar et al. investigated the binding between $\mathrm{Cu}(\mathrm{II})$ and $\mathrm{Cr}(\mathrm{VI})$ ions with graphene oxide $(\mathrm{GO}) / \mathrm{SiO}_{2} @$ PANI composite using FTIR and XPS analysis [73]. By analyzing FTIR peaks of $\mathrm{SiO}_{2}$ functional groups, they found a compressed $\mathrm{SiO}_{2}$ network in $\mathrm{GO} / \mathrm{SiO}_{2} @ \mathrm{PANI}$. All the observed bands of $\mathrm{GO} / \mathrm{SiO}_{2} @ \mathrm{PANI}$ after $\mathrm{Cu}(\mathrm{II})$ and $\mathrm{Cr}(\mathrm{VI})$ binding slightly shifted due to the interaction with metal ions. The peaks for $-\mathrm{OH},-\mathrm{NH},-\mathrm{NH}_{2},-\mathrm{COOH}$ groups moved to low intensity, revealing the role of these groups in the adsorption of $\mathrm{Cu}(\mathrm{II})$ as well as $\mathrm{Cr}(\mathrm{VI})$ onto $\mathrm{GO} / \mathrm{SiO}_{2} @ \mathrm{PANI}$. The slight change in the binding energies and the occurrence of new peaks from XPS data confirmed the interaction between the metal ions and $\mathrm{GO} / \mathrm{SiO}_{2} @ \mathrm{PANI}$ composite. The highest sequestering of $\mathrm{Cu}(\mathrm{II})$ was observed at pH 5.3 (i.e. $>\mathrm{pH}_{\mathrm{zpc}}$ ) due to electrostatic interaction between the deprotonated hydroxyl, carboxylic, and amine groups of the $\mathrm{GO} / \mathrm{SiO}_{2} @$ PANI. Apart from the electrostatic interaction and complexation, adsorption of $\mathrm{Cu}(\mathrm{II})$ may also be caused by the cation- $\pi$ interaction. The $\mathrm{GO} / \mathrm{SiO}_{2} @$ PANI contains the electron-rich domains on the aromatic rings, and $\mathrm{Cu}(\mathrm{II})$ can bind with $\mathrm{GO} / \mathrm{SiO}_{2} @$ PANI via cation- $\pi$ interaction. The adsorption reduction behavior of $\mathrm{Cr}(\mathrm{VI})$ to $\mathrm{Cr}(\mathrm{III})$ can be explained via a multiple stage mechanism: (i) at the optimum $\mathrm{pH}(\mathrm{pH} 3)$ for the removal of $\mathrm{Cr}(\mathrm{IV}), \mathrm{Cr}(\mathrm{VI})$ adsorbs electrostatically on the active sites (e.g. $-\mathrm{N}^{+}$and $-\mathrm{OH}_{2}{ }^{+}$) of $\mathrm{GO} / \mathrm{SiO}_{2} @ \mathrm{PANI}$; (ii) electron rich N containing functional groups reduce $\mathrm{Cr}(\mathrm{VI})$ to Cr (III); and (iii) deprotonated -N - groups of PANI, carboxylic and hydroxyl groups of the GO and $\mathrm{SiO}_{2}$ adsorb Cr (III) [73].

Table 2. Adsorption of inorganic heavy metals and metalloids by PANI-based adsorbents.

| PANI-based adsorbents | $\mathbf{T}\left({ }^{\circ} \mathbf{C}\right)$ | $\mathbf{p H}$ | Pollutants | $\mathbf{Q}(\mathbf{m g} / \mathbf{g})$ | References |
| :--- | :--- | :--- | :--- | :--- | :--- |
| PANI polymer |  |  |  |  |  |
| PANI particles | 25 | 7 | $C r(V I)$ | - | $[86]$ |
| PANI nanosheets | 25 | 2 | $C r(V I)$ | 263.2 | $[54]$ |
| PANI derivatives |  |  |  |  |  |


| PANI-based adsorbents | T ( ${ }^{\circ} \mathrm{C}$ ) | pH | Pollutants | Q (mg/g) | References |
| :---: | :---: | :---: | :---: | :---: | :---: |
| PpPDA microspheres | 25 | - | Pb (II) | > 1800 | [92] |
| MnO2@PmPDA | 25 | 5.4 | Pb (II) | 367 | [91] |
| PoPDA hollow microspheres | 30 | 6 | Pb (II) | 103.2 | [87] |
| PmPDA/ $/ \mathrm{Fe}_{3} \mathrm{O}_{4}$ composite | 25 | 1-13 | $\mathrm{Cr}(\mathrm{VI})$ | 2750 | [93] |
| PmPDA-polypyrrole | 25 | 2 | Cr (VI) | 526 | [90] |
| PmPDA-Fe ${ }_{3} \mathrm{O}_{4}$ | 15-45 | 2-9 | $\mathrm{Cr}(\mathrm{VI})$ | 246.1 | [89] |
| Hollow Cu-PmPDA particles | 35 | 5.2 | As(V) | 27.4 | [88] |
| PANI copolymers |  |  |  |  |  |
| pyrrole | 25 | 2 | Cr (VI) | 227 | [95] |
| 1,8-diaminonaphthalene | 25 | 4 | Cr (VI) | 150 | [94] |
| PANI grafted chitosan | 25 | 6 | Pb (II) | 3.2 | [96] |
| m-phenylenediamine | 25 | 6 | Cd(II) | - | [97] |
| PANI-modified mats and <br> membranes |  |  |  |  |  |
| Polyacrylonitrile mat | 25 | 2 | $\mathrm{Cr}(\mathrm{VI})$ | 52 | [98] |
| Cellulose acetate membrane | 30 | 5 | Hg (II) | 280 | [99] |
| Polystyrene mat | 25 | 4 | Pb (II) | 312 | [100] |
| Poly(ethylene-co-vinyl alcohol) mat | 20 | 2 | $\mathrm{Cr}(\mathrm{VI})$ | 93.1 | [101] |
| Polyimide membrane | 25 | 1 | $\mathrm{Cr}(\mathrm{VI})$ | 48.9 | [102] |
| Synthetic polymers |  |  |  |  |  |
| Polystyrene | 30 | 4.1 | Hg(II) | - | [66] |
| Polystyrene | 30 | 4 | Cr (VI) | 19 | [103] |
| PEG | 25 | 5 | $\mathrm{Cr}(\mathrm{VI})$ | 109.9 | [104] |
| PPy | 25 | 2 | $\mathrm{Cr}(\mathrm{VI})$ | 227 | [68] |
| Polyvinyl alcohol | 50 | 4 | $\mathrm{Cr}(\mathrm{VI})$ | 111.2 | [105] |
| Polyethylene terephthalate | 25 | 2 | $\mathrm{Cr}(\mathrm{VI})$ | 3.0 | [106] |
| Polysaccharide biopolymers |  |  |  |  |  |
| Alkyl-substituted PANI/ chitosan | 25 | 4.2 | Cr (VI) | 229.8 | [61] |
| Chitosan grafted PANI | 30 | 4.2 | Cr (VI) | 165.6 |  |
| PANI/CA | 25 | 3-7 | $\mathrm{Cu}(\mathrm{II})$ | 68.0 | [107] |
|  | 25 | 3-7 | Pb (II) | 251.3 |  |
| Chitosan grafted PANI | 30 | 4.2 | Cr (VI) | 179.2 | [108] |
| PANI/dextrin | 25 | 3 | $\mathrm{Cu}(\mathrm{II})$ | - | [60] |
| PANI coated ethyl cellulose | - | 1 | Cr (VI) | 38.8 | [109] |
| PpPDA/chitosan | 30 | 6 | $\mathrm{Cu}(\mathrm{II})$ | 650 | [110] |
| PANI coated chitin | 30 | 2 | Cr (VI) | 23 | [65] |
| Sodium alginate/PANI | 30 | 2 | Cr (VI) | 78.63 | [80] |
| Agriculture wastes |  |  |  |  |  |
| PANI/SD | 25 | 6 | Pb (II) | - | [111] |
| PANI/jute fiber | 20 | 3 | Cr (VI) | 62.9 | [112] |
| PANI/SD | 20 | 5 | $\mathrm{Cu}(\mathrm{II})$ | 208.8 | [113] |


| PANI-based adsorbents | T ( ${ }^{\circ} \mathrm{C}$ ) | pH | Pollutants | Q (mg/g) | References |
| :---: | :---: | :---: | :---: | :---: | :---: |
| PANI/SD | 25 | 5 | Cd(II) | 430 | [114] |
| PANI/RHA | 25 | 9 | Hg (II) | - | [67] |
| PANI/RHA | 25 | 3 | Zn (II) | 24.3 | [115] |
| PANI-kapok fiber | 30 | 4-5 | Cr (VI) | 66.2 | [59] |
| PANI/SD/PEG | 25 | <2 | Cr (VI) | 3.2 | [116] |
| Carbon-based materials |  |  |  |  |  |
| Multiwalled CNT | 25 | 4.5 | $\mathrm{Cr}(\mathrm{VI})$ | 31.8 | [62] |
| GO | 25 | 5.8 | $\mathrm{Cu}(\mathrm{II})$ | 38 | [117] |
| GO | 30 | 6.5 | Cr (VI) | 192 | [118] |
| PANI/GO-CNT | 25 | 2 | Cr (VI) | 142.9 | [119] |
| PANI/GO | 25 | 7 | Zn (II) | 210 | [85] |
| Metal compounds |  |  |  |  |  |
| $\mathrm{Fe}_{3} \mathrm{O}_{4}$ | 25 | 3 | $\mathrm{Cr}(\mathrm{VI})$ | 6 | [120] |
| Magnetic mesoporous silica | 25 | 8 | Cr (VI) | 193.9 | [64] |
| Magnetic mesoporous carbon | 20 | 2 | Cr (VI) | 150 | [121] |
| Clay minerals |  |  |  |  |  |
| PANI/sepiolite | 25 | 2 | Cr (VI) | 206.6 | [122] |
| PANI/palygorskite | 15 | 5.8 | Cr (VI) | 11.5 | [63] |
| PANI/clay | 25 | 5 | Pb (II) | 7.4 | [84] |
| PANI/Halloysite | 25 | 5.1 | $\mathrm{Cr}(\mathrm{VI})$ | 69.3 | [123] |
| PANI/starch/montmorillonite | 25 | 2 | Cr (VI) | 208.3 | [124] |

ES: emeraldine salt; PoPDA: Poly(ortho- phenylenediamine); PmPDA: Poly(meta- phenylenediamine); PpPDA: Poly(para- phenylenediamine): PEG: polyethylene glycol; CA: cellulose acetate; SD: sawdust; RHA: rice husk ash; CNT: carbon nanotube; GO: graphene oxide.

### 3.2. Organic dyes

Wastewater containing dyes mainly come from the textile industry, and annually $\sim 280,000$ tons of dyes mixed with saline water are discharged into the environment, posing detrimental impacts on public health and ecological systems [125-127]. The dye is generally described as a colored substance having two key components: chromophores, contributed to the color, and auxochromes, attached to the chromophore and having aromatic molecular structures. Typically, dyes can be classified into cationic (all basic dyes), anionic (direct, acid, and reactive dyes), and non-ionic (disperse dyes). Many efforts have been made to remove dyes
from water and wastewater as they can cause mutagenesis, chromosomal fractures, carcinogenesis, and respiratory toxicity $[10,15,128]$. As summarized in Table 3, different PANI-based adsorbents have been applied for the removal of a diversity of dyes, such as reactive dyes [129], acid dyes [130], methylene blue [131], methyl orange [77], Orange 5 [132], direct dyes [133], Congo Red [119], and Rhodamine B [134].

Adsorption of dyes by PANI-based adsorbents is influenced by many factors. Functional groups of the adsorbent and adsorbate, and the possible reactions between them, are the key factors determining the effectiveness of the adsorption [10]. Dyes can be cationic, anionic, or non-ionic upon dissolution in aqueous media [10]. Therefore, the reversely charged adsorbents can have electrostatic interactions and chemisorptions with dyes. The charge properties of PANI-based adsorbents can be tailored by altering the surface charge of PANI during doping/dedoping, changing the solution pH , and incorporating fillers with charges opposite to those of the target dyes. Patra et al. investigated the removal of anionic dyes by potash alum doped PANI and reported that the main mechanisms for the dye removal by PANI are the interactions of the positive fragments of the PANI backbone with the negatively charged parts of the dye molecule, and the basic sites of PANI with the positively charged dye [135]. Khadir et al. reported similar electrostatic interactions between the negative $-\mathrm{SO}_{3}{ }^{-}$group of the anionic dye and the positive groups of a sisal fibers/PPy/PANI bio-adsorbent in the acidic medium as shown in Fig. 9 [129].
Doped polyaniline


Fig. 9. Schematic illustration of the possible mechanisms (including physical and chemical interactions: electrostatic intereaction, $\pi-\pi$ interaction and hydrogen bonding) in the adsorption of anionic (left) and cationic (right) organic dyes by PANI-based adsorbents.

Moreover, hydrophilic/hydrophobic properties, hydrogen bonding, and dipole-dipole interaction also play important roles in the adsorption process [15]. Compared with a single adsorbent, the PANI composite adsorbent often has enhanced adsorption capability, due to the increased surface areas and pore volumes of the composite [11]. Removal of different dyes by numerous PANI-based nanocomposites, such as PANI/agriculture waste, PANI/biopolymer, PANI/polypyrrole, PANI/polyvinyl alcohol, PANI/polyacid, PANI/silica, PANI/zirconium, PANI/silver, PANI/iron oxide have been examined recently, and the possible adsorption mechanisms (taking the cationic methylene blue dye as an example), including electrostatic attraction, $\pi-\pi$ interaction, and hydrogen bonding are schematically illustrated in Fig. 9 [15].

Magnetic nanomaterials have attracted growing research interest for dye removal from wastewater. In particular, magnetic mesoporous nanocomposites are composed of a magnetic core with strong magnetic interactions and a polymeric shell with functional groups that maintain adsorbent pore size distribution and
prevent agglomeration of magnetic metal compounds [16]. A schematic representation of the synthesis and functionalization of the $\mathrm{Fe}_{3} \mathrm{O}_{4} @$ PANI composite via in-situ polymerization, and adsorption/desorption mechanism of malachite green dye is represented in Fig. 10 [136]. To achieve high adsorption capacity by increasing the surface area, kapok fiber-oriented PANI was prepared by the chemical oxidation method for the removal of sulfonated dyes (Fig. 11), and the monolayer adsorption capacities based on the Langmuir equation were $40.8,188.7$, and $192.3 \mathrm{mg} / \mathrm{g}$ for Congo Red, Orange II, and Orange G, respectively [137].
(A)


$\mathrm{Fe}_{3} \mathrm{O}_{4} @$ PANI composite
(B)


Fig. 10. Schematic representation of (A) the synthesis and functionalization of the $\mathrm{Fe}_{3} \mathrm{O}_{4}$ nanoparticles via insitu polymerization and (B) adsorption/desorption mechanism of Malachite green dye [136].


Fig. 11. Schematic illustration for preparing kapok fiber (KF) oriented PANI [137].

Table 3. Adsorption of typical dyes by PANI-based adsorbents.

| PANI-based adsorbents | T ( ${ }^{\circ} \mathrm{C}$ ) | pH | Pollutants | Q (mg/g) | References |
| :---: | :---: | :---: | :---: | :---: | :---: |
| PANI polymer |  |  |  |  |  |
| PANI-ES | 25 | 5 | Orange G | - | [56] |
| PANI-ES | 25 | 3.4 | Orange G | - | [138] |
| PANI nanotubes | 25 | 10.0 | Methylene Blue | 4.8 | [139] |
| Cross-linked PANI | 25 | 6.5 | Methylene Blue |  | [57] |
| PANI nanofibers | 25 | 6.0 | Reactive black 5 | 51.02 | [140] |
| PANI derivatives |  |  |  |  |  |
| $\mathrm{Cu}-\mathrm{PmPDA}$ microparticles | 25 | Acidic | Methylene Blue | 96.1 | [141] |
| PmPDA nanobelts | 30 | - | Orange G | 460 | [142] |
| Synthetic polymers |  |  |  |  |  |
| Polyacid | 25 | 7 | Methyl Orange | 466.5 | [143] |
| Polyacid | 25 | 7 | Rhodamine B | 440 |  |
| Polyamide | 40 | Basic | Methyl Orange | 81.9 | [144] |
| PANI/chitosan | 25 | 3 | Congo Red | 322.54 | [145] |
| PANI/Starch | 25 | 3 | Reactive Black 5 | 0.81 | [146] |
| PANI/EPS | 25 | 3 | Remazol | - | [147] |
| Starch-MMT/PANI | - | 2 | Reactive Blue 194 | 91.74 | [148] |
| Chitosan-PANI/ZnO | - | 3.1 | Reactive Orange16 | 476.2 | [149] |
| Chitosan-grafted-PANI | 25 | 2 | Acid Red 4 | 92 | [150] |
| Chitosan/PANI hybrid | 25 | 4 | Acid Green 25 | 240.4 | [151] |
| Agriculture wastes |  |  |  |  |  |
| PANI-kapok fiber | 30 | 3 | Congo Red | 40.8 | [137] |
| PANI/HCl-MRH | - | 3 | Acid Red 18 | 100 | [152] |
| PANI-lignocellulose | 25 | 4.3 | Congo Red | 1672.5 | [153] |
| kapok paper/zinc oxide/PANI | - |  | Methyl orange | - | [154] |
| PANI-kapok fiber | 25 | 4.3 | Methyl orange | 75.76 | [82] |
| Metal compounds |  |  |  |  |  |
| Nickel ferrite nanoparticle | 25 | - | Basic Blue 41 | 0.50 | [155] |
| $\mathrm{Fe}_{3} \mathrm{O}_{4}$ | 30 | 7 | Malachite Green | 4.82 | [156] |


| PANI-based adsorbents | $\mathbf{T}\left({ }^{\circ} \mathbf{C}\right)$ | $\mathbf{p H}$ | Pollutants | $\mathbf{Q ~ ( m g / g )}$ | References |
| :--- | :--- | :--- | :--- | :--- | :--- |
| $\mathrm{NiFe}_{2} \mathrm{O}_{4}$ | 30 | $3.0-4.4$ | Alizarin Red S | 186 | $[157]$ |
| Zinc ferrite | 25 | 2 | Rhodamine B | 1000 | $[134]$ |
| Clay minerals |  |  |  |  |  |
| PANI/Beidellite | 25 | 3 | Acid Yellow 194 | 123 | $[130]$ |
| PANI/Clinoptilolite | 30 | 2 | Acid Violet 90 | 72.46 | $[158]$ |
| PANI/montmorillonite | $20-50$ | $2-6$ | Acid Green 25 | $49.3-49.8$ | $[72]$ |

ES: emeraldine salt; PmPDA: poly(meta- phenylenediamine); EPS: extracellular polymeric substance; MMT: montmorillonite; MRH: modified rice husk.

### 3.3. Emerging pollutants

Emerging pollutants (EPs), are manufactured or man-made chemicals or materials that can probably alter the metabolism of living ecosystems due to their toxicity and persistence [159, 160]. The main EPs include pharmaceuticals, personal care products (PCPs), stimulants, industrial additives, and agrochemicals (e.g. pesticides and herbicides) as summarized in Fig. 12 [161]. EPs widely exist in wastewater, surface water, groundwater, and drinking water, and pose great risks to human health and natural ecosystems, such as hormonal interference in aquatic animals, genotoxicity, endocrine disruption, and immune toxicity [24].

For metal ions, electrostatic interaction is the main driving force for adsorption; while for EPs, as most of them are organic compounds with complex molecular structures, multiple interactions may exist between the adsorbents and the pollutants. In particular, many EPs, such as pharmaceuticals have aromatic and aliphatic structures, which means that $\pi-\pi$ interactions and hydrophobic interactions will also play important roles in their adsorption by PANI-based adsorbents. In terms of electrostatic interaction similar to the case of metal ions, positively charged adsorbates are more likely to be removed by negatively charged adsorbents and vice versa. Moreover, PANI is a conducting polymer and its electric charge can be easily changed by doping/dedoping or changing the solution pH [162]. The zeta potential analysis is used to evaluate the charge stability of the adsorbent/water system. Negative $\mathrm{CuFe}_{2} \mathrm{O}_{4} / \mathrm{PANI}$ composite has net charges at $\mathrm{pH}>6.0$ and
positive charges at $\mathrm{pH}<6.0$. At low pH values (e.g., $\mathrm{pH}<5.0$ for $\mathrm{PANI}-\mathrm{HCl}$ ), nitrogen atoms of imine groups were bound by protons, causing the PANI surfaces carrying positive charges [71]. This would lead to effective removal of negative pollutants, such as PFASs [13, 163].


Fig. 12. Main categories and examples of emerging contaminants, modified from [161].

Structural similarity (molecular weight or size) between EPs and dye molecules makes them suitable for sorptive removal by PANI-based adsorbents [5]. Recently, several studies have been reported on the removal of EPs, such as drugs [164], insecticides [165], bisphenol A (BPA) [166], personal care products [167], PFASs
[168], PCBs [169], endocrine disrupting compounds (EDCs) [170] by PANI-based adsorbents. Xu et al. synthesized PANI nanotubes for the removal of perflourooctane sulfonate (PFOS) and perfluorooctanoate (PFOA) from aqueous solutions [13]. The adsorption isotherms of PFOS and PFOA on the PANI nanotubes fitted well to the Langmuir model, suggesting the monolayer adsorption behavior. The adsorption capacities were 1651 and $1100 \mathrm{mg} / \mathrm{g}$ for PFOS and PFOA, respectively, after 48h reaching equilibrium adsorption. They also reported that electrostatic attraction played an important role in the adsorption and other forces such as hydrophobic interaction might be also involved.

Zhou et al. synthesized PANI coated $\mathrm{Fe}_{3} \mathrm{O}_{4}\left(\mathrm{Fe}_{3} \mathrm{O}_{4} / \mathrm{PANI}\right)$ for the removal of BPA, a-naphthol, and b-naphthol and reported adsorption capacity of $23.09 \mathrm{mg} / \mathrm{g}$ for BPA at 298 K [171]. In another study, Laabd et al. employed an efficient recyclable PANI/PPy copolymer for the removal of personal care products hemimellitic, trimellitic, and pyromellitic acids from aqueous solution [167]. They found that spontaneous and endothermic adsorption was well described by the pseudo-second-order kinetic model and the Langmuir isotherm model with the maximum adsorbed quantities of $79.94,93.55$, and $111.29 \mathrm{mg} / \mathrm{g}$ for hemimellitic, trimellitic, and pyromellitic acids, respectively. They suggested that physisorption of carboxylic groups of the pollutants on the hydrogen atoms in amine groups was the main adsorption mechanism. The main adsorption mechanism between organic contaminants and the PANI-based adsorbent was repellent or attractive electrostatic interactions depending on the charge densities of the adsorbate and the adsorbent which were influenced by the solution pH [172]. Thus, similar to the adsorption of organic dyes and heavy metals, solution pH strongly affects the adsorption process and must be adjusted to provide an appropriate surface charge for the adsorption. Hlekelele et al. synthesized PANI/PPy and zero-valent iron-based materials for the removal of BPA from aqueous solution and found that surface-bound hydroxyl radicals were responsible for the degradation of BPA [172]. They investigated the effect of pH and reported that at high pH values, the surface of the adsorbent
accumulates a negative charge which is repellent to the negatively charged anions that BPA exists as at high pH values. Therefore, electrostatic interactions were part of the adsorption mechanism. It was also found that PPy/PANI was a relatively hydrophobic material at pH 6.2 , and BPA was also hydrophobic, meaning that the hydrophobic non-electrostatic interactions were also responsible for the adsorption of BPA onto PPy/PANI. The data of recently published studies on the adsorption of emerging pollutants by PANI-based adsorbents are given in Table 4.

Table 4. Removal of emerging pollutants by PANI-based adsorbents.

| PANI-based adsorbents | T ${ }^{\circ} \mathrm{C}$ ) | pH | Pollutants | Q (mg/g) | References |
| :---: | :---: | :---: | :---: | :---: | :---: |
| PANI base nanotubes | 25 | 2 | Perflourooctane sulfonate | 1651 | [13] |
|  | 25 | 2 | Perfluorooctanoate | 1100 |  |
| $\mathrm{Fe}_{3} \mathrm{O}_{4} /$ PANI core-shell | 25 | 7 | Bisphenol A | 23.1 | [171] |
|  | 25 | 7 | $\alpha$-naphthol | 28.7 |  |
|  | 25 | 7 | $\beta$-naphthol | 9.1 |  |
| PANI/magnetic GO | 25 | 6 | Ciprofloxacin | 89.68 | [173] |
|  | 35 | 6 | Ciprofloxacin | 94.43 |  |
|  | 45 | 6 | Ciprofloxacin | 97.78 |  |
| PANI derived porous carbon | 25 | 7 | Triclosan | 1318 | [174] |
|  | 25 | 7 | Oxybenzone | 906 |  |
|  | 25 | 7 | p-chloro-m-xylenol | 840 |  |
| PANI/PPy copolymer | 20 | 6 | Hemimellitic acid | 79.94 | [167] |
|  | 20 | 6 | Trimellitic acid | 93.55 |  |
|  | 20 | 6 | Pyromellitic acid | 111.29 |  |
| PANI/PPy-Fe ${ }^{0}$ | 25 | < 6 | Bisphenol A | 90 | [172] |
| PANI-derived carbon | 25 | 7 | Atrazine herbicides | 943 | [175] |
|  | 25 | 7 | Diuron herbicides | 884 |  |
| PANI/PPy | 25 | 6.2 | Metronidazole | 65 | [176] |
| PANI/peanut husk | 35 | 3 | Imidacloprid insecticide | 7 | [165] |

## 4. Adsorption kinetics and desorption

The study of the adsorption kinetics via diffusion models and reaction models is of great significance to determine the adsorption performance and gain insights into the adsorption mechanisms. The diffusion models propose three steps of film diffusion, intraparticle diffusion, and adsorption-desorption on the active sites
[177]. Conversely, reaction models, derived from chemical reaction kinetics without considering the diffusion steps are widely used for the removal of aqueous pollutants by PANI based adsorbents [75, 157]. The pseudo-first-order (PFO) model (Eq. 1), also called the Lagergren kinetic model, is the earliest equation for evaluating adsorption mechanisms and potential rate-controlling steps [178].
$\ln \left(q_{e}-q_{t}\right)=\ln q_{e}-K t$
where $K$ is the rate constant of PFO adsorption $\left(\min ^{-1}\right) ; \mathrm{q}_{\mathrm{e}}$ and $\mathrm{q}_{\mathrm{t}}$ are the adsorption capacity at equilibrium and at time t , respectively $\left(\mathrm{mg} \cdot \mathrm{g}^{-1}\right)$. However, the pseudo-second-order (PSO) model (Eq. 2) has been more widely used for adsorption:
$\frac{t}{q_{t}}=\frac{1}{K_{2} q_{e}^{2}}+\frac{t}{q_{e}}$
where $K_{2}\left(\mathrm{~g} \cdot \mathrm{mg}^{-1} \mathrm{~min}^{-1}\right)$ is the rate constant of PSO adsorption.

The main difference of these most frequently used models is that the PFO model does not represent the effects of the adsorbent concentration or the available active sites on the adsorption process. Most adsorption studies have preferred the PSO model more than the PFO model as the former has more accurate predictions under the equilibrium state and complexity of the adsorbent surface as well as the good fitting to linear regression [179].

Determination of the rate-controlling step of the adsorption is very important in exploring the adsorption mechanism and designing an adsorption process [180]. Weber and Morris introduced the intraparticle diffusion model [181]:
$q_{t}=K_{i d} t^{0.5}+C$
where $K_{i d}$ is the rate constant and $C$ is a constant. The slope of the plot of $q_{t}{ }^{v s} . t^{0.5}$ gives the $K_{i d}$ value. In some
cases, multi-linearity may be observed, suggesting more than one rate controlling steps. The term C is expected to be directly proportional to the boundary layer thickness [167]. A sharp slope may be seen at the first time interval due to the external diffusion [182,183]. The intraparticle diffusion model has been widely used for adsorption kinesics of PANI-based adsorbents for aqueous pollutants [184-186]. However, for an accurate application of this equation, the adsorption data should be carefully divided into 2-3 time intervals and then each step fits individually [157, 183]. When the PANI-based adsorbents are highly heterogeneous, the Elovich model can be used to determine the chemisorption by [187]:
$q_{t}=\frac{1}{\beta} \ln (\alpha \beta)+\frac{1}{\beta} \ln (t)$
where $\alpha$ is the initial adsorption rate constant $\left(\mathrm{g} \cdot \mathrm{mg}^{-1} \mathrm{~min}^{-1}\right)$ and $\beta$ is the desorption rate constant $\left(\mathrm{g} \cdot \mathrm{mg}^{-1}\right)$. The Elovich model does not provide a particular mechanism insight, but it evaluates the surface heterogeneity of the adsorbents [129]. The Elovich model has been applied for the removal of aqueous pollutants by PANIbased adsorbents and the reported regression coefficients $(0.85-0.95)$ was lower than those from the PSO and PFO models [55, 129, 188, 189].

Overall, aqueous pollutants removal by PANI-based adsorbents with nitrogen-rich functional amine and imine groups is mainly based on monolayer chemisorption. The system can be heterogeneous or homogeneous due to the morphological nature and distribution of the functional groups. However, physisorption may also take place owing to the porous structure of the polymeric adsorbent, which can contribute to the adsorption process. Moreover, diffusion may occur and act as the rate-controlling step when the system is not well agitated or the concentration of the adsorbate decreases to very low levels at the end of the adsorption.

Regeneration of the exhausted adsorbent is often investigated via adsorption-desorption reactions [165, 190, 191]. Regeneration of the adsorbent (i.e. desorption) occurs in a system that is in the equilibrium between bulk
phase and the adsorbed phase. Desorption studies evaluate the nature of adsorption and regeneration capacity of the adsorbent [192]. Adsorption of pollutants by PANI-based adsorbents is highly affected by the solution pH . Therefore, selection of the desorption solution depends on the pH for adsorption [76, 165, 190-192]. Mashkoor and Nasar studied the adsorption of crystal violet dye from water by PANI/tectona grandis sawdust and investigated different desorption agents, such as $\mathrm{HCl}, \mathrm{CH}_{3} \mathrm{COOH}, \mathrm{NaCl}, \mathrm{NaOH}$, and $\mathrm{H}_{2} \mathrm{O}$ [189]. They reported that HCl was the best desorption agent since the maximum adsorption was observed at a base condition with pH 12 . On the contrary, Ishtiaq et. al. reported effective desorption of PANI/peanut husk with NaOH as the regeneration agent, as the adsorbent showed high adsorption efficiency in acidic media [165]. To conclude, regeneration of PANI-based adsorbents can be achieved effectively by altering the solution pH due to the doping/dedoping feature of PANI, and it helps reduce the usage of adsorbents [68, 76, 189, 192].

## 5. Concluding remarks and perspectives

This work gives a comprehensive review of PANI-based adsorbents for removal of various pollutants from drinking water and wastewater. These adsorbents have unique electrical characteristics and many other advantages, such as facile synthesis, low cost of monomers, excellent environmental stability, facile control of reversible properties by charge exchange doping and protonation, simple acid-base doping/dedoping process, reactive NH- groups, and tunable properties. In particular, doping/dedoping of PANI-based adsorbents alters the morphology, pore size, surface charge and functional groups of the adsorbents, leading to enhanced adsorbent-adsorbate interactions and thus pollutant removal performance.

PANI-based adsorbents have been used for the removal of three key types of pollutants, including heavy metals and metalloids, organic dyes, and emerging pollutants. The key adsorption mechanisms include electrostatic interactions, van der Waals forces, $\pi-\pi$ interactions, and/or hydrogen bonding. These adsorbents possess
diverse morphologies, such as nanorod, nanotube, nanofiber, nanoflake, nanopowder depending on the synthesis conditions. Therefore, adjusting the desirable morphology with optimal properties, such as chelation, complexation, and effective surface area is required for a specific adsorbate. A size selectivity mechanism can also be achieved by adjusting the pore size of the composite adsorbent. Regeneration of PANI-based adsorbents can be effectively achieved by altering the solution pH due to the doping/dedoping feature of PANI.

In the future, engineering PANI-based sorbents for removal of emerging micropollutants can be of high interest to both academia and wider water sector. An array of techniques could be proposed to further enhance the removal capacity and selectivity in the adsorption process. For instance, incorporation of 2D or 3D high aspect ratio fillers, such as clays or graphene into PANI could further increase the effective surface area of the adsorbent. Degradation of the adsorbates, which facilitates the regeneration of the adsorbents, can be realized by incorporating catalytic fillers, such as $\mathrm{TiO}_{2}$ and reactive carbon-based materials [193]. To this end, reactive carbon-based materials are of special significance due to their low costs and environmentally benign nature. Carbon materials (e.g. graphene) can be either doped with hetero-atom elements or engineered to have rich radicals and defects, which make them reactive to degrade various pollutants [194, 195]. PANI-based adsorbents can also be combined with membrane technology to engineer adsorptive membranes for various aqueous pollutants removal, which would take the advantages of the beneficial properties of each technology [193, 196].

In addition, enhancement of charge-selective adsorption could be achieved by manipulating the functional groups of the adsorbent and the introduction of specific functional groups. Furthermore, enhancement of sizeselective adsorption can be informed by advanced characterization methods and achieved by manipulation of adsorbent morphology. With these possible avenues delineated, one key barrier to commercialization depends on the economic and efficient scale-up of PANI-based sorbents during manufacturing.

## Acknowledgments

We acknowledge the financial support from SUSTech Environmental Co. Ltd, Guangdong Provincial Key

Laboratory of Soil and Groundwater Pollution Control (No. 2017B030301012), and State Environmental
Protection Key Laboratory of Integrated Surface Water-Groundwater Pollution Control.

## References

[1] L.F. Greenlee, D.F. Lawler, B.D. Freeman, B. Marrot, P. Moulin, Reverse osmosis desalination: Water sources, technology, and today's challenges, Water Research, 43 (2009) 2317-2348.
[2] R.F. Service, Desalination Freshens Up, Science, 313 (2006) 1088-1090.
[3] M. Li, F. Sun, W. Shang, X. Zhang, W. Dong, Z. Dong, S. Zhao, Removal mechanisms of perfluorinated compounds (PFCs) by nanofiltration: Roles of membrane-contaminant interactions, Chemical Engineering Journal, 406 (2021) 126814.
[4] Z. He, S. Mahmud, Y. Yang, L. Zhu, Y. Zhao, Q. Zeng, Z. Xiong, S. Zhao, Polyvinylidene fluoride membrane functionalized with zero valent iron for highly efficient degradation of organic contaminants, Separation and Purification Technology, 250 (2020) 117266.
[5] A. Taghizadeh, M. Taghizadeh, M. Jouyandeh, M.K. Yazdi, P. Zarrintaj, M.R. Saeb, E.C. Lima, V.K. Gupta, Conductive polymers in water treatment: A review, Journal of Molecular Liquids, 312 (2020) 113447.
[6] S. Zhao, L. Shen, Editorial: Advanced Membrane Science and Technology for Sustainable Environmental Applications, Frontiers in Chemistry, 8 (2020).
[7] A. Nasar, Polyaniline (PANI) based composites for the adsorptive treatment of polluted water, Smart Polymers and Composites, 21 (2018) 40.
[8] T.C. Maponya, M.J. Hato, T.R. Somo, K.E. Ramohlola, M.D. Mokhafola, G.R. Monama, A. Maity, K.D. Modibane, L.M. Katata-Seru, Polyaniline-Based Nanocomposites for Environmental Remediation, in: Heavy Metal Ions Removal, IntechOpen, 2019.
[9] N. Singh, G. Nagpal, S. Agrawal, Water purification by using adsorbents: a review, Environmental technology \& innovation, 11 (2018) 187-240.
[10] E.N. Zare, A. Motahari, M. Sillanpää, Nanoadsorbents based on conducting polymer nanocomposites with main focus on polyaniline and its derivatives for removal of heavy metal ions/dyes: A review, Environmental Research, 162 (2018) 173-195.
[11] A. Muhammad, A.-u.-H.A. Shah, S. Bilal, G. Rahman, Basic Blue Dye Adsorption from Water using Polyaniline/Magnetite (Fe3O4) Composites: Kinetic and Thermodynamic Aspects, Materials, 12 (2019) 1764. [12] S. Shahabuddin, R. Khanam, M. Khalid, N.M. Sarih, J.J. Ching, S. Mohamad, R. Saidur, Synthesis of 2D boron nitride doped polyaniline hybrid nanocomposites for photocatalytic degradation of carcinogenic dyes from aqueous solution, Arabian journal of chemistry, 11 (2018) 1000-1016.
[13] C. Xu, H. Chen, F. Jiang, Adsorption of perflourooctane sulfonate (PFOS) and perfluorooctanoate (PFOA) on polyaniline nanotubes, Colloids and Surfaces A: Physicochemical and Engineering Aspects, 479 (2015) 60-67.
[14] S. Mondal, U. Rana, P. Das, S. Malik, Network of Polyaniline Nanotubes for Wastewater Treatment and Oil/Water Separation, ACS Applied Polymer Materials, 1 (2019) 1624-1633.
[15] A. Nasar, F. Mashkoor, Application of polyaniline-based adsorbents for dye removal from water and wastewater-a review, Environmental Science and Pollution Research, 26 (2019) 5333-5356.
[16] Y. Jiang, Z. Liu, G. Zeng, Y. Liu, B. Shao, Z. Li, Y. Liu, W. Zhang, Q. He, Polyaniline-based adsorbents for removal of hexavalent chromium from aqueous solution: a mini review, Environ Sci Pollut Res, 25 (2018) 6158-6174.
[17] P. Miretzky, A.F. Cirelli, Hg (II) removal from water by chitosan and chitosan derivatives: a review, Journal of hazardous materials, 167 (2009) 10-23.
[18] A.P. Lim, A.Z. Aris, A review on economically adsorbents on heavy metals removal in water and wastewater, Reviews in Environmental Science and Bio/Technology, 13 (2014) 163-181.
[19] M. Agarwal, K. Singh, Heavy metal removal from wastewater using various adsorbents: a review, Journal of Water Reuse and Desalination, 7 (2017) 387-419.
[20] X. Yang, Y. Wan, Y. Zheng, F. He, Z. Yu, J. Huang, H. Wang, Y.S. Ok, Y. Jiang, B. Gao, Surface functional groups of carbon-based adsorbents and their roles in the removal of heavy metals from aqueous solutions: a critical review, Chemical Engineering Journal, 366 (2019) 608-621.
[21] E. Eskandari, M. Kosari, M.H.D.A. Farahani, N.D. Khiavi, M. Saeedikhani, R. Katal, M. Zarinejad, A review on polyaniline-based materials applications in heavy metals removal and catalytic processes, Separation and Purification Technology, 231 (2020) 115901.
[22] K.H. Kucharzyk, R. Darlington, M. Benotti, R. Deeb, E. Hawley, Novel treatment technologies for PFAS compounds: A critical review, Journal of environmental management, 204 (2017) 757-764.
[23] D. Zhang, W. Zhang, Y. Liang, Adsorption of perfluoroalkyl and polyfluoroalkyl substances (PFASs) from aqueous solution-A review, Science of The Total Environment, 694 (2019) 133606.
[24] N. Patel, M. Khan, S. Shahane, D. Rai, D. Chauhan, C. Kant, V. Chaudhary, Emerging pollutants in aquatic environment: source, effect, and challenges in biomonitoring and bioremediation-a review, Pollution, 6 (2020) 99-113.
[25] S. Pandey, A comprehensive review on recent developments in bentonite-based materials used as adsorbents for wastewater treatment, Journal of Molecular Liquids, 241 (2017) 1091-1113.
[26] M. Shahadat, M.Z. Khan, P.F. Rupani, A. Embrandiri, S. Sultana, S.Z. Ahammad, S. Wazed Ali, T.R. Sreekrishnan, A critical review on the prospect of polyaniline-grafted biodegradable nanocomposite, Advances in Colloid and Interface Science, 249 (2017) 2-16.
[27] H. Sadegh, G.R. SHAHRYARI, A. Masjedi, Z. Mahmoodi, M. Kazemi, A review on Carbon nanotubes adsorbents for the removal of pollutants from aqueous solutions, (2016).
[28] S. Bhandari, Polyaniline: structure and properties relationship, in: Polyaniline Blends, Composites, and Nanocomposites, Elsevier, 2018, pp. 23-60.
[29] J.R. Araujo, E.S. Lopes, R. de Castro, C.A. Senna, E. de Robertis, R.S. Neves, B. Fragneaud, A. Nykänen, A. Kuznetsov, B.S. Archanjo, Characterization of Polyaniline-Based Blends, Composites, and Nanocomposites, in: Polyaniline Blends, Composites, and Nanocomposites, Elsevier, 2018, pp. 209-233.
[30] A. Kumar, L.K. Jangir, Y. Kumari, M. Kumar, V. Kumar, K. Awasthi, Electrical behavior of dualmorphology polyaniline, Journal of Applied Polymer Science, 133 (2016).
[31] A. Kumar, V. Kumar, K. Awasthi, Polyaniline-carbon nanotube composites: preparation methods, properties, and applications, Polymer-Plastics Technology and Engineering, 57 (2018) 70-97.
[32] A.M. Youssef, Morphological studies of polyaniline nanocomposite based mesostructured TiO2 nanowires as conductive packaging materials, RSC Advances, 4 (2014) 6811.
[33] Z.A. Boeva, V.G. Sergeyev, Polyaniline: Synthesis, properties, and application, Polymer Science Series C, 56 (2014) 144-153.
[34] C. Dhand, N. Dwivedi, S. Mishra, P.R. Solanki, V. Mayandi, R.W. Beuerman, S. Ramakrishna, R.

Lakshminarayanan, B.D. Malhotra, Polyaniline-based biosensors, Nanobiosensors in disease diagnosis, 4 (2015) 25-46.
[35] R. Kaur, M. Duhan, Polyaniline as an Inceptive Dye Adsorbent from Effluent, Advanced materials for wastewater treatment, (2017) 51-99.
[36] J. Li, Y. Huang, D. Shao, Conjugated Polymer - Based Composites for Water Purification, in: Fundamentals of Conjugated Polymer Blends, Copolymers and Composites, 2015.
[37] M. Joulazadeh, A.H. Navarchian, Alcohol sensibility of one-dimensional polyaniline and polypyrrole nanostructures, Ieee Sensors Journal, 15 (2014) 1697-1704.
[38] A. Samadi, A.H. Navarchian, Matrimid - polyaniline/clay mixed - matrix membranes with plasticization resistance for separation of $\mathrm{CO}_{2}$ from natural gas, Polymers for Advanced Technologies, 27 (2016) 1228-1236. [39] A.H. Navarchian, Z. Hasanzadeh, M. Joulazadeh, Effect of polymerization conditions on reaction yield, conductivity, and ammonia sensing of polyaniline, Advances in polymer technology, 32 (2013).
[40] H. Abdali, A. Ajji, Preparation of electrospun nanocomposite nanofibers of polyaniline/poly (methyl methacrylate) with amino-functionalized graphene, Polymers, 9 (2017) 453.
[41] Y.-Z. Long, M.-M. Li, C. Gu, M. Wan, J.-L. Duvail, Z. Liu, Z. Fan, Recent advances in synthesis, physical properties and applications of conducting polymer nanotubes and nanofibers, Progress in Polymer Science, 36 (2011) 1415-1442.
[42] M. Ayad, G. El-Hefnawy, S. Zaghlol, Facile synthesis of polyaniline nanoparticles; its adsorption behavior, Chemical engineering journal, 217 (2013) 460-465.
[43] A. Samadi, A.H. Navarchian, Separation of Carbon Dioxide from Natural Gas by Matrimid-Based Mixed Matrix Membranes, Gas Processing Journal, 4 (2016) 1-18.
[44] Y. Ma, J. Zhang, G. Zhang, H. He, Polyaniline nanowires on Si surfaces fabricated with DNA templates, Journal of the American Chemical Society, 126 (2004) 7097-7101.
[45] K. Huang, Y. Zhang, Y. Long, J. Yuan, D. Han, Z. Wang, L. Niu, Z. Chen, Preparation of highly conductive, self - assembled gold/polyaniline nanocables and polyaniline nanotubes, Chemistry - A European Journal, 12 (2006) 5314-5319.
[46] Z. Zhang, M. Wan, Y. Wei, Electromagnetic functionalized polyaniline nanostructures, Nanotechnology, 16 (2005) 2827.
[47] G. Li, H. Peng, Y. Wang, Y. Qin, Z. Cui, Z. Zhang, Synthesis of polyaniline nanobelts, Macromolecular rapid communications, 25 (2004) 1611-1614.
[48] C. Su, G. Wang, F. Huang, Preparation and characterization of composites of polyaniline nanorods and multiwalled carbon nanotubes coated with polyaniline, Journal of applied polymer science, 106 (2007) 42414247.
[49] J. Wang, D. Zhang, One - Dimensional Nanostructured Polyaniline: Syntheses, Morphology Controlling, Formation Mechanisms, New Features, and Applications, Advances in Polymer Technology, 32 (2013) E323E368.
[50] E. Eskandari, M. Kosari, M.H. Davood Abadi Farahani, N.D. Khiavi, M. Saeedikhani, R. Katal, M. Zarinejad, A review on polyaniline-based materials applications in heavy metals removal and catalytic processes, Separation and Purification Technology, 231 (2020) 115901.
[51] T.L.A. Campos, D.F. Kersting, C.A. Ferreira, Chemical synthesis of polyaniline using sulphanilic acid as dopant agent into the reactional medium, Surface and Coatings Technology, 122 (1999) 3-5.
[52] X.-X. Liu, L. Zhang, Y.-B. Li, L.-J. Bian, Z. Su, L.-J. Zhang, Electropolymerization of aniline in aqueous solutions at pH 2 to 12, Journal of materials science, 40 (2005) 4511-4515.
[53] J. Wang, L. Bi, Y. Ji, H. Ma, X. Yin, Removal of humic acid from aqueous solution by magnetically separable polyaniline: Adsorption behavior and mechanism, Journal of Colloid and Interface Science, 430
(2014) 140-146.
[54] Y. Tian, H. Li, Y. Liu, G. Cui, Z. Sun, S. Yan, Morphology-dependent enhancement of template-guided tunable polyaniline nanostructures for the removal of $\mathrm{Cr}(\mathrm{vi})$, RSC Advances, 6 (2016) 10478-10486.
[55] M. Tanzifi, S.H. Hosseini, A.D. Kiadehi, M. Olazar, K. Karimipour, R. Rezaiemehr, I. Ali, Artificial neural network optimization for methyl orange adsorption onto polyaniline nano-adsorbent: kinetic, isotherm and thermodynamic studies, Journal of Molecular Liquids, 244 (2017) 189-200.
[56] J. Li, Q. Wang, Y. Bai, Y. Jia, P. Shang, H. Huang, F. Wang, Preparation of a novel acid doped polyaniline adsorbent for removal of anionic pollutant from wastewater, Journal of Wuhan University of TechnologyMater. Sci. Ed., 30 (2015) 1085-1091.
[57] M. Ayad, S. Zaghlol, Nanostructured crosslinked polyaniline with high surface area: Synthesis, characterization and adsorption for organic dye, Chemical engineering journal, 204 (2012) 79-86.
[58] P.E.d.G. Alonso, Alternative synthesis methods of electrically conductive bacterial cellulose-polyaniline composites for potential drug delivery application, in, 2017.
[59] Y. Zheng, W. Wang, D. Huang, A. Wang, Kapok fiber oriented-polyaniline nanofibers for efficient Cr (VI) removal, Chemical Engineering Journal, 191 (2012) 154-161.
[60] E.N. Zare, M.M. Lakouraj, Biodegradable polyaniline/dextrin conductive nanocomposites: synthesis, characterization, and study of antioxidant activity and sorption of heavy metal ions, Iranian Polymer Journal, 23 (2014) 257-266.
[61] A.G. Yavuz, E. Dincturk-Atalay, A. Uygun, F. Gode, E. Aslan, A comparison study of adsorption of Cr (VI) from aqueous solutions onto alkyl-substituted polyaniline/chitosan composites, Desalination, 279 (2011) 325-331.
[62] J. Wang, X. Yin, W. Tang, H. Ma, Combined adsorption and reduction of Cr (VI) from aqueous solution on polyaniline/multiwalled carbon nanotubes composite, Korean Journal of Chemical Engineering, 32 (2015) 1889-1895.
[63] J. Wang, X. Han, Y. Ji, H. Ma, Adsorption of $\mathrm{Cr}(\mathrm{VI})$ from aqueous solution onto short-chain polyaniline/palygorskite composites, Desalination and Water Treatment, 56 (2014) 356-365.
[64] L. Tang, Y. Fang, Y. Pang, G. Zeng, J. Wang, Y. Zhou, Y. Deng, G. Yang, Y. Cai, J. Chen, Synergistic adsorption and reduction of hexavalent chromium using highly uniform polyaniline-magnetic mesoporous silica composite, Chemical Engineering Journal, 254 (2014) 302-312.
[65] R. Karthik, S. Meenakshi, Synthesis, characterization and $\mathrm{Cr}(\mathrm{VI})$ uptake study of polyaniline coated chitin, International Journal of Biological Macromolecules, 72 (2015) 235-242.
[66] R. Gupta, R. Singh, S. Dubey, Removal of mercury ions from aqueous solutions by composite of polyaniline with polystyrene, Separation and Purification Technology, 38 (2004) 225-232.
[67] M. Ghorbani, M.S. Lashkenari, H. Eisazadeh, Application of polyaniline nanocomposite coated on rice husk ash for removal of Hg (II) from aqueous media, Synthetic metals, 161 (2011) 1430-1433.
[68] M. Bhaumik, A. Maity, V.V. Srinivasu, M.S. Onyango, Removal of hexavalent chromium from aqueous solution using polypyrrole-polyaniline nanofibers, Chemical Engineering Journal, 181-182 (2012) 323-333.
[69] A.S. Gh, A.H. Navarchian, Matrimid - polyaniline/clay mixed - matrix membranes with plasticization resistance for separation of CO2 from natural gas, Polymers for Advanced Technologies, 27 (2016) 1228-1236.
[70] B. Gao, Y. Li, Z. Chen, Adsorption behaviour of functional grafting particles based on polyethyleneimine for chromate anions, Chemical Engineering Journal, 150 (2009) 337-343.
[71] S.S. Hassan, A. H Kamel, A. A Hassan, A.E.-G.E. Amr, A. El-Naby, M.A. Al-Omar, A.Y. Sayed, CuFe2O4/Polyaniline (PANI) Nanocomposite for the Hazard Mercuric Ion Removal: Synthesis, Characterization, and Adsorption Properties Study, Molecules, 25 (2020) 2721.
[72] S. Kalotra, R. Mehta, Synthesis of polyaniline/clay nanocomposites by in situ polymerization and its
application for the removal of Acid Green 25 dye from wastewater, Polymer Bulletin, (2020).
[73] R. Kumar, M.A. Barakat, M.A. Taleb, M.K. Seliem, A recyclable multifunctional graphene oxide/SiO2@polyaniline microspheres composite for $\mathrm{Cu}(\mathrm{II})$ and $\mathrm{Cr}(\mathrm{VI})$ decontamination from wastewater, Journal of Cleaner Production, 268 (2020) 122290.
[74] S. Dutta, K. Manna, S.K. Srivastava, A.K. Gupta, M.K. Yadav, Hollow Polyaniline Microsphere/Fe 3 O 4 Nanocomposite as an Effective Adsorbent for Removal of Arsenic from Water, Scientific reports, 10 (2020) 1-14.
[75] H. Soltani, A. Belmokhtar, F.Z. Zeggai, A. Benyoucef, S. Bousalem, K. Bachari, Copper(II) Removal from Aqueous Solutions by PANI-Clay Hybrid Material: Fabrication, Characterization, Adsorption and Kinetics Study, Journal of Inorganic and Organometallic Polymers and Materials, 29 (2019) 841-850.
[76] Y. Liu, L. Song, L. Du, P. Gao, N. Liang, S. Wu, T. Minami, L. Zang, C. Yu, X. Xu, Preparation of Polyaniline/Emulsion Microsphere Composite for Efficient Adsorption of Organic Dyes, Polymers (Basel), 12 (2020) 167.
[77] M. Duhan, R. Kaur, Adsorptive removal of methyl orange with polyaniline nanofibers: an unconventional adsorbent for water treatment, Environmental Technology, (2019) 1-14.
[78] J. Vidya, A.J. Bosco, K. Haribaaskar, P. Balamurugan, Polyaniline-BiVO4 nanocomposite as an efficient adsorbent for the removal of methyl orange from aqueous solution, Materials Science in Semiconductor Processing, 103 (2019) 104645.
[79] A. Ahmad, H. Ahmad, D. Lokhat, A. Golandaj, D. Ramjugernath, S. Mohd-Setapar, Recent advances in polyaniline-based nanocomposites as potential adsorbents for trace metal ions, in: Polymer-based Nanocomposites for Energy and Environmental Applications, Elsevier, 2018, pp. 597-615.
[80] R. Karthik, S. Meenakshi, Removal of $\mathrm{Cr}(\mathrm{VI})$ ions by adsorption onto sodium alginate-polyaniline nanofibers, International Journal of Biological Macromolecules, 72 (2015) 711-717.
[81] S.A. Vali, M. Baghdadi, M.A. Abdoli, Immobilization of polyaniline nanoparticles on the polyurethane
foam derived from waste materials: A porous reactive fixed-bed medium for removal of mercury from contaminated waters, Journal of environmental chemical engineering, 6 (2018) 6612-6622.
[82] M.U. Herrera, C.M. Futalan, R. Gapusan, M.D.L. Balela, Removal of methyl orange dye and copper (II) ions from aqueous solution using polyaniline-coated kapok (Ceiba pentandra) fibers, Water Science and Technology, 78 (2018) 1137-1147.
[83] R. Ahmad, I. Hasan, A. Mittal, Adsorption of Cr (VI) and Cd (II) on chitosan grafted polyaniline-OMMT nanocomposite: isotherms, kinetics and thermodynamics studies, Desalin Water Treat, 58 (2017) 144-153.
[84] S. Piri, Z.A. Zanjani, F. Piri, A. Zamani, M. Yaftian, M. Davari, Potential of polyaniline modified clay nanocomposite as a selective decontamination adsorbent for $\mathrm{Pb}(\mathrm{II})$ ions from contaminated waters; kinetics and thermodynamic study, Journal of Environmental Health Science and Engineering, 14 (2016) 20.
[85] M. Ramezanzadeh, M. Asghari, B. Ramezanzadeh, G. Bahlakeh, Fabrication of an efficient system for Zn ions removal from industrial wastewater based on graphene oxide nanosheets decorated with highly crystalline polyaniline nanofibers (GO-PANI): Experimental and ab initio quantum mechanics approaches, Chemical Engineering Journal, 337 (2018) 385-397.
[86] S.M. RIAHI, S.M. Borghei, A. Olad, M.J. Chaichi, Influence of polyaniline synthesis conditions on its capability for removal and recovery of chromium from aqueous solution, (2011).
[87] J. Han, J. Dai, R. Guo, Highly efficient adsorbents of poly(o-phenylenediamine) solid and hollow submicrospheres towards lead ions: A comparative study, Journal of Colloid and Interface Science, 356 (2011) 749-756.
[88] S. Dai, B. Peng, L. Zhang, L. Chai, T. Wang, Y. Meng, X. Li, H. Wang, J. Luo, Sustainable synthesis of hollow Cu-loaded poly(m-phenylenediamine) particles and their application for arsenic removal, RSC

Advances, 5 (2015) 29965-29974.
[89] T. Wang, L. Zhang, C. Li, W. Yang, T. Song, C. Tang, Y. Meng, S. Dai, H. Wang, L. Chai, J. Luo, Synthesis of Core-Shell Magnetic Fe3O4@poly(m-Phenylenediamine) Particles for Chromium Reduction and Adsorption, Environmental Science \& Technology, 49 (2015) 5654-5662.
[90] N.H. Kera, M. Bhaumik, K. Pillay, S.S. Ray, A. Maity, m-Phenylenediamine-modified polypyrrole as an efficient adsorbent for removal of highly toxic hexavalent chromium in water, Materials Today Communications, 15 (2018) 153-164.
[91] T. Xiong, X. Yuan, H. Wang, L. Jiang, Z. Wu, H. Wang, X. Cao, Integrating the (311) facet of MnO2 and the fuctional groups of poly (m-phenylenediamine) in core-shell MnO2@ poly (m-phenylenediamine) adsorbent to remove Pb ions from water, Journal of Hazardous Materials, 389 (2020) 122154.
[92] Y.-L. Min, T. Wang, Y.-G. Zhang, Y.-C. Chen, The synthesis of poly(p-phenylenediamine) microstructures without oxidant and their effective adsorption of lead ions, Journal of Materials Chemistry, 21 (2011) 6683.
[93] S. Yang, D. Liu, F. Liao, T. Guo, Z. Wu, T. Zhang, Synthesis, characterization, morphology control of poly (p-phenylenediamine)-Fe3O4 magnetic micro-composite and their application for the removal of Cr2O72- from water, Synthetic Metals, 162 (2012) 2329-2336.
[94] Q. Li, Y. Qian, H. Cui, Q. Zhang, R. Tang, J. Zhai, Preparation of poly(aniline-1,8-diaminonaphthalene) and its application as adsorbent for selective removal of $\mathrm{Cr}(\mathrm{VI})$ ions, Chemical Engineering Journal, 173 (2011) 715-721.
[95] M. Bhaumik, A. Maity, V. Srinivasu, M.S. Onyango, Removal of hexavalent chromium from aqueous solution using polypyrrole-polyaniline nanofibers, Chemical Engineering Journal, 181 (2012) 323-333.
[96] R. Karthik, S. Meenakshi, Removal of Pb (II) and Cd (II) ions from aqueous solution using polyaniline grafted chitosan, Chemical Engineering Journal, 263 (2015) 168-177.
[97] E.N. Zare, M.M. Lakouraj, A. Ramezani, Effective Adsorption of Heavy Metal Cations by Superparamagnetic Poly(aniline-co-m-phenylenediamine)@Fe3O4Nanocomposite, Advances in Polymer Technology, 34 (2015) n/a-n/a.
[98] J. Wang, K. Pan, E.P. Giannelis, B. Cao, Polyacrylonitrile/polyaniline core/shell nanofiber mat for removal of hexavalent chromium from aqueous solution: mechanism and applications, RSC advances, 3 (2013) 8978-8987.
[99] R. Li, L. Liu, F. Yang, Removal of aqueous $\mathrm{Hg}(\mathrm{II})$ and $\mathrm{Cr}(\mathrm{VI})$ using phytic acid doped polyaniline/cellulose acetate composite membrane, Journal of Hazardous Materials, 280 (2014) 20-30.
[100] J.J. Alcaraz-Espinoza, A.E. Chávez-Guajardo, J.C. Medina-Llamas, C.A.S. Andrade, C.P. de Melo, Hierarchical Composite Polyaniline-(Electrospun Polystyrene) Fibers Applied to Heavy Metal Remediation, ACS Applied Materials \& Interfaces, 7 (2015) 7231-7240.
[101] D. Xu, S. Yan, W. weng, R. Xiao, Cost effective nanofiber composite membranes for $\mathrm{Cr}(\mathrm{vi})$ adsorption with high durability, RSC Advances, 6 (2016) 44723-44731.
[102] N. Wang, Y. Chen, J. Ren, X. Huang, X. Chen, G. Li, D. Liu, Electrically conductive polyaniline/polyimide microfiber membrane prepared via a combination of solution blowing and subsequent in situ polymerization growth, Journal of Polymer Research, 24 (2017).
[103] M.S. Lashkenari, B. Davodi, M. Ghorbani, H. Eisazadeh, Use of core-shell polyaniline/polystyrene nanocomposite for removal of Cr (VI), High Performance Polymers, 24 (2012) 345-355.
[104] M.R. Samani, S.M. Borghei, A. Olad, M.J. Chaichi, Removal of chromium from aqueous solution using polyaniline - Poly ethylene glycol composite, Journal of Hazardous Materials, 184 (2010) 248-254.
[105] R. Karthik, S. Meenakshi, Adsorption study on removal of $\mathrm{Cr}(\mathrm{VI})$ ions by polyaniline composite, Desalination and Water Treatment, 54 (2014) 3083-3093.
[106] T.S. Najim, A.J. Salim, Polyaniline nanofibers and nanocomposites: Preparation, characterization, and
application for $\mathrm{Cr}(\mathrm{VI})$ and phosphate ions removal from aqueous solution, Arabian Journal of Chemistry, 10 (2017) S3459-S3467.
[107] N. Jiang, Y. Xu, Y. Dai, W. Luo, L. Dai, Polyaniline nanofibers assembled on alginate microsphere for $\mathrm{Cu} 2+$ and $\mathrm{Pb} 2+$ uptake, Journal of hazardous materials, 215 (2012) 17-24.
[108] R. Karthik, S. Meenakshi, Facile synthesis of cross linked-chitosan-grafted-polyaniline composite and its $\mathrm{Cr}(\mathrm{VI})$ uptake studies, International journal of biological macromolecules, 67 (2014) 210-219.
[109] B. Qiu, C. Xu, D. Sun, H. Yi, J. Guo, X. Zhang, H. Qu, M. Guerrero, X. Wang, N. Noel, Z. Luo, Z. Guo, S. Wei, Polyaniline Coated Ethyl Cellulose with Improved Hexavalent Chromium Removal, ACS Sustainable Chemistry \& Engineering, 2 (2014) 2070-2080.
[110] N.A. Abdelwahab, E.A. Al-Ashkar, M.A.A. El-Ghaffar, Preparation and characterization of eco-friendly poly(p-phenylenediamine) and its composite with chitosan for removal of copper ions from aqueous solutions, Transactions of Nonferrous Metals Society of China, 25 (2015) 3808-3819.
[111] R. Ansari, F. Raofie, Removal of Mercuric Ion from Aqueous Solutions Using Sawdust Coated by Polyaniline, E-Journal of Chemistry, 3 (2006) 35-43.
[112] P.A. Kumar, S. Chakraborty, M. Ray, Removal and recovery of chromium from wastewater using short chain polyaniline synthesized on jute fiber, Chemical Engineering Journal, 141 (2008) 130-140.
[113] D. Liu, D. Sun, Y. Li, Removal of $\mathrm{Cu}(\mathrm{II})$ and Cd(II) From Aqueous Solutions by Polyaniline on Sawdust, Separation Science and Technology, 46 (2010) 321-329.
[114] M.S. Mansour, M.E. Ossman, H.A. Farag, Removal of Cd (II) ion from waste water by adsorption onto polyaniline coated on sawdust, Desalination, 272 (2011) 301-305.
[115] M. Ghorbani, Removal of Zinc Ions from Aqueous Solution Using Polyaniline Nanocomposite Coated on Rice Husk, Iranica Journal of Energy \& Environment, 3 (2012) 66-71.
[116] M.R. Samani, D. Toghraie, Removal of hexavalent chromium from water using polyaniline/wood sawdust/poly ethylene glycol composite: an experimental study, Journal of Environmental Health Science and Engineering, 17 (2019) 53.
[117] Y. Liu, L. Chen, Y. Li, P. Wang, Y. Dong, Synthesis of magnetic polyaniline/graphene oxide composites and their application in the efficient removal of Cu (II) from aqueous solutions, Journal of environmental chemical engineering, 4 (2016) 825-834.
[118] D.K.L. Harijan, V. Chandra, Polyaniline functionalized graphene sheets for treatment of toxic hexavalent chromium, Journal of Environmental Chemical Engineering, 4 (2016) 3006-3012.
[119] M.O. Ansari, R. Kumar, S.A. Ansari, S.P. Ansari, M. Barakat, A. Alshahrie, M.H. Cho, Anion selective pTSA doped polyaniline@ graphene oxide-multiwalled carbon nanotube composite for Cr (VI) and Congo red adsorption, Journal of colloid and interface science, 496 (2017) 407-415.
[120] H. Gu, S.B. Rapole, J. Sharma, Y. Huang, D. Cao, H.A. Colorado, Z. Luo, N. Haldolaarachchige, D.P. Young, B. Walters, S. Wei, Z. Guo, Magnetic polyaniline nanocomposites toward toxic hexavalent chromium removal, RSC Advances, 2 (2012) 11007.
[121] G. Yang, L. Tang, Y. Cai, G. Zeng, P. Guo, G. Chen, Y. Zhou, J. Tang, J. Chen, W. Xiong, Effective removal of $\mathrm{Cr}(\mathrm{vi})$ through adsorption and reduction by magnetic mesoporous carbon incorporated with polyaniline, RSC Adv., 4 (2014) 58362-58371.
[122] J. Chen, X. Hong, Q. Xie, D. Li, Q. Zhang, Highly efficient removal of chromium(VI) from aqueous solution using polyaniline/sepiolite nanofibers, Water Science and Technology, 70 (2014) 1236-1243.
[123] T. Zhou, C. Li, H. Jin, Y. Lian, W. Han, Effective adsorption/reduction of Cr (VI) oxyanion by halloysite@ polyaniline hybrid nanotubes, ACS applied materials \& interfaces, 9 (2017) 6030-6043.
[124] A. Olad, M. Bastanian, H. Bakht Khosh Hagh, Thermodynamic and Kinetic Studies of Removal Process of Hexavalent Chromium Ions from Water by Using Bio-conducting Starch-Montmorillonite/Polyaniline

Nanocomposite, Journal of Inorganic and Organometallic Polymers and Materials, 29 (2019) 1916-1926.
[125] M. Jiang, K. Ye, J. Deng, J. Lin, W. Ye, S. Zhao, B. Van der Bruggen, Conventional Ultrafiltration As Effective Strategy for Dye/Salt Fractionation in Textile Wastewater Treatment, Environmental Science \& Technology, 52 (2018) 10698-10708.
[126] W. Ye, H. Liu, F. Lin, J. Lin, S. Zhao, S. Yang, J. Hou, S. Zhou, B. Van der Bruggen, High-flux nanofiltration membranes tailored by bio-inspired co-deposition of hydrophilic g-C3N4 nanosheets for enhanced selectivity towards organics and salts, Environmental Science: Nano, 6 (2019) 2958-2967.
[127] M. Jiang, K. Ye, J. Lin, X. Zhang, W. Ye, S. Zhao, B. Van der Bruggen, Effective dye purification using tight ceramic ultrafiltration membrane, Journal of Membrane Science, 566 (2018) 151-160.
[128] W. Huang, S. Wang, D. Li, Polymers and Polymer Composites for Adsorptive Removal of Dyes in Water Treatment, in: Inamuddin, S. Thomas, R. Kumar Mishra, A.M. Asiri (Eds.) Sustainable Polymer Composites and Nanocomposites, Springer International Publishing, Cham, 2019, pp. 519-556.
[129] A. Khadir, M. Negarestani, H. Ghiasinejad, Low-cost sisal fibers/polypyrrole/polyaniline biosorbent for sequestration of reactive orange 5 from aqueous solutions, Journal of Environmental Chemical Engineering, 8 (2020) 103956.
[130] N.A. Gengec, M. Isgoren, M. Kobya, S. Veli, E. Gengec, Optimization of beidellite/polyaniline production conditions by central composite design for removal of acid yellow 194, Journal of Polymers and the Environment, 26 (2018) 2619-2631.
[131] E. El-Sharkaway, R.M. Kamel, I.M. El-Sherbiny, S.S. Gharib, Removal of methylene blue from aqueous solutions using polyaniline/graphene oxide or polyaniline/reduced graphene oxide composites, Environmental Technology, (2019) 1-9.
[132] A. Hsini, A. Essekri, N. Aarab, M. Laabd, A. Ait Addi, R. Lakhmiri, A. Albourine, Elaboration of novel polyaniline@Almond shell biocomposite for effective removal of hexavalent chromium ions and Orange G dye from aqueous solutions, Environmental Science and Pollution Research, 27 (2020) 15245-15258.
[133] N. Gopal, M. Asaithambi, P. Sivakumar, V. Sivakumar, Adsorption studies of a direct dye using polyaniline coated activated carbon prepared from Prosopis juliflora, Journal of water process Engineering, 2 (2014) 87-95.
[134] K. Rachna, A. Agarwal, N.B. Singh, Preparation and characterization of zinc ferrite-Polyaniline nanocomposite for removal of rhodamine B dye from aqueous solution, Environmental Nanotechnology, Monitoring \& Management, 9 (2018) 154-163.
[135] B.N. Patra, D. Majhi, Removal of anionic dyes from water by potash alum doped polyaniline: investigation of kinetics and thermodynamic parameters of adsorption, The Journal of Physical Chemistry B, 119 (2015) 8154-8164.
[136] T.K. Mahto, A.R. Chowdhuri, S.K. Sahu, Polyaniline - functionalized magnetic nanoparticles for the removal of toxic dye from wastewater, Journal of Applied Polymer Science, 131 (2014).
[137] Y. Zheng, Y. Liu, A. Wang, Kapok Fiber Oriented Polyaniline for Removal of Sulfonated Dyes, Industrial \& Engineering Chemistry Research, 51 (2012) 10079-10087.
[138] D. Mahanta, G. Madras, S. Radhakrishnan, S. Patil, Adsorption of Sulfonated Dyes by Polyaniline Emeraldine Salt and Its Kinetics, The Journal of Physical Chemistry B, 112 (2008) 10153-10157.
[139] M.M. Ayad, A.A. El-Nasr, Adsorption of Cationic Dye (Methylene Blue) from Water Using Polyaniline Nanotubes Base, The Journal of Physical Chemistry C, 114 (2010) 14377-14383.
[140] P. Baruah, D. Mahanta, Adsorption and reduction: combined effect of polyaniline emeraldine salt for removal of $\mathrm{Cr}(\mathrm{VI})$ from aqueous medium, Bulletin of Materials Science, 39 (2016) 875-882.
[141] W. Yu, L. Zhang, Y. Meng, S. Dai, Z. Su, L. Chai, H. Wang, High conversion synthesis of functional poly(m-phenylenediamine) nanoparticles by $\mathrm{Cu}-\mathrm{OH}$-assisted method and its superior ability toward $\mathrm{Ag}+$
adsorption, Synthetic Metals, 176 (2013) 78-85.
[142] Y. Meng, L. Zhang, L. Chai, W. Yu, T. Wang, S. Dai, H. Wang, Facile and large-scale synthesis of poly(m-phenylenediamine) nanobelts with high surface area and superior dye adsorption ability, RSC Adv., 4 (2014) 45244-45250.
[143] J. Shen, S. Shahid, I. Amura, A. Sarihan, M. Tian, E.A.C. Emanuelsson, Enhanced adsorption of cationic and anionic dyes from aqueous solutions by polyacid doped polyaniline, Synthetic Metals, 245 (2018) 151159.
[144] Y. Xia, T. Li, J. Chen, C. Cai, Polyaniline (skin)/polyamide 6 (core) composite fiber: Preparation, characterization and application as a dye adsorbent, Synthetic Metals, 175 (2013) 163-169.
[145] V. Janaki, B.-T. Oh, K. Shanthi, K.-J. Lee, A. Ramasamy, S. Kamala-Kannan, Polyaniline/chitosan composite: an eco-friendly polymer for enhanced removal of dyes from aqueous solution, Synthetic Metals, 162 (2012) 974-980.
[146] V. Janaki, K. Vijayaraghavan, B.-T. Oh, K.-J. Lee, K. Muthuchelian, A. Ramasamy, S. Kamala-Kannan, Starch/polyaniline nanocomposite for enhanced removal of reactive dyes from synthetic effluent, Carbohydrate polymers, 90 (2012) 1437-1444.
[147] V. Janaki, B.-T. Oh, K. Vijayaraghavan, J.-W. Kim, S.A. Kim, A. Ramasamy, S. Kamala-Kannan, Application of bacterial extracellular polysaccharides/polyaniline composite for the treatment of Remazol effluent, Carbohydrate polymers, 88 (2012) 1002-1008.
[148] A. Olad, F.F. Azhar, M. Shargh, S. Jharfi, Application of response surface methodology for modeling of reactive dye removal from solution using starch-montmorillonite/polyaniline nanocomposite, Polymer Engineering \& Science, 54 (2013) 1595-1607.
[149] P. Kannusamy, T. Sivalingam, Synthesis of porous chitosan-polyaniline/ZnO hybrid composite and application for removal of reactive orange 16 dye, Colloids and Surfaces B: Biointerfaces, 108 (2013) 229238.
[150] M. Abbasian, M. Jaymand, P. Niroomand, A. Farnoudian-Habibi, S.G. Karaj-Abad, Grafting of aniline derivatives onto chitosan and their applications for removal of reactive dyes from industrial effluents, International journal of biological macromolecules, 95 (2017) 393-403.
[151] I. Minisy, N. Salahuddin, M. Ayad, Chitosan/polyaniline hybrid for the removal of cationic and anionic dyes from aqueous solutions, Journal of Applied Polymer Science, 136 (2019) 47056.
[152] M.H. Qomi, H. Eisazadeh, M. Hosseini, H.A. Namaghi, Manganese removal from aqueous media using polyaniline nanocomposite coated on wood sawdust, Synthetic metals, 194 (2014) 153-159.
[153] S. Debnath, N. Ballav, A. Maity, K. Pillay, Development of a polyaniline-lignocellulose composite for optimal adsorption of Congo red, International Journal of Biological Macromolecules, 75 (2015) 199-209.
[154] A.C. Lacuesta, M.U. Herrera, R. Manalo, M.D.L. Balela, Fabrication of kapok paper-zinc oxidepolyaniline hybrid nanocomposite for methyl orange removal, Surface and Coatings Technology, 350 (2018) 971-976.
[155] N.M. Mahmoodi, Nickel Ferrite Nanoparticle: Synthesis, Modification by Surfactant and Dye Removal Ability, Water, Air, \& Soil Pollution, 224 (2013).
[156] L. Xie, R. Jiang, F. Zhu, H. Liu, G. Ouyang, Application of functionalized magnetic nanoparticles in sample preparation, Analytical and Bioanalytical Chemistry, 406 (2013) 377-399.
[157] Y.-d. Liang, Y.-j. He, Y.-h. Zhang, Q.-q. zhu, Adsorption property of alizarin red S by NiFe2O4/polyaniline magnetic composite, Journal of Environmental Chemical Engineering, 6 (2018) 416425.
[158] F. Akti, M. Okur, The Removal of Acid Violet 90 from Aqueous Solutions Using PANI and PANI/Clinoptilolite Composites: Isotherm and Kinetics, Journal of Polymers and the Environment, 26 (2018)

4233-4242.
[159] A. Fischer, T. Ter Laak, J. Bronders, N. Desmet, E. Christoffels, A. van Wezel, J.P. van der Hoek, Decision support for water quality management of contaminants of emerging concern, Journal of environmental management, 193 (2017) 360-372.
[160] S. Sauvé, M. Desrosiers, A review of what is an emerging contaminant, Chemistry Central Journal, 8 (2014) 1-7.
[161] A.L. Cukierman, G.V. Nunell, P.R. Bonelli, Removal of emerging pollutants from water through adsorption onto carbon-based materials, in: Emerging and Nanomaterial Contaminants in Wastewater, Elsevier, 2019, pp. 159-213.
[162] S. Acharya, S. Sahoo, S. Sonal, J.H. Lee, B.K. Mishra, G.C. Nayak, Adsorbed Cr(VI) based activated carbon/polyaniline nanocomposite: A superior electrode material for asymmetric supercapacitor device, Composites Part B: Engineering, 193 (2020) 107913.
[163] E. Gagliano, M. Sgroi, P.P. Falciglia, F.G. Vagliasindi, P. Roccaro, Removal of poly-and perfluoroalkyl substances (PFAS) from water by adsorption: role of PFAS chain length, effect of organic matter and challenges in adsorbent regeneration, Water Research, 171 (2020) 115381.
[164] S. Vijayalakshmi, E. Kumar, P.S. Venkatesh, A. Raja, Preparation of zirconium oxide with polyaniline nanocatalyst for the decomposition of pharmaceutical industrial wastewater, Ionics, 26 (2020) 1507-1513.
[165] F. Ishtiaq, H.N. Bhatti, A. Khan, M. Iqbal, A. Kausar, Polypyrole, polyaniline and sodium alginate biocomposites and adsorption-desorption efficiency for imidacloprid insecticide, International Journal of Biological Macromolecules, 147 (2020) 217-232.
[166] Q. Zhou, Y. Wang, J. Xiao, Y. Zhan, Preparation of magnetic core-shell Fe3O4@polyaniline composite material and its application in adsorption and removal of tetrabromobisphenol A and decabromodiphenyl ether, Ecotoxicology and Environmental Safety, 183 (2019) 109471.
[167] M. Laabd, A. Hallaoui, N. Aarb, A. Essekri, H. Eljazouli, R. Lakhmiri, A. Albourine, Removal of polycarboxylic benzoic acids using polyaniline-polypyrrole copolymer: experimental and DFT studies, Fibers and Polymers, 20 (2019) 896-905.
[168] P. Meng, S. Deng, B. Wang, J. Huang, Y. Wang, G. Yu, Superhigh adsorption of perfluorooctane sulfonate on aminated polyacrylonitrile fibers with the assistance of air bubbles, Chemical Engineering Journal, 315 (2017) 108-114.
[169] F. Okumu, M. Matoetoe, O. Fatoki, A novel polyaniline titanium oxide sawdust composite adsorbent for polychlorinated biphenyls, Science Journal of Chemistry, 1 (2013) 29-37.
[170] X. Jiang, J. Cheng, H. Zhou, F. Li, W. Wu, K. Ding, Polyaniline-coated chitosan-functionalized magnetic nanoparticles: Preparation for the extraction and analysis of endocrine-disrupting phenols in environmental water and juice samples, Talanta, 141 (2015) 239-246.
[171] Q. Zhou, Y. Wang, J. Xiao, H. Fan, Adsorption and removal of bisphenol A, $\alpha$-naphthol and $\beta$-naphthol from aqueous solution by Fe3O4@polyaniline core-shell nanomaterials, Synthetic Metals, 212 (2016) 113122.
[172] L. Hlekelele, N.E. Nomadolo, K.Z. Setshedi, L.E. Mofokeng, A. Chetty, V.P. Chauke, Synthesis and characterization of polyaniline, polypyrrole and zero-valent iron-based materials for the adsorptive and oxidative removal of bisphenol-A from aqueous solution, RSC Advances, 9 (2019) 14531-14543.
[173] M.K.M. Nodeh, S. Soltani, S. Shahabuddin, H.R. Nodeh, H. Sereshti, Equilibrium, kinetic and thermodynamic study of magnetic polyaniline/graphene oxide based nanocomposites for ciprofloxacin removal from water, Journal of Inorganic and Organometallic Polymers and Materials, 28 (2018) 1226-1234. [174] D.K. Yoo, H.J. An, N.A. Khan, G.T. Hwang, S.H. Jhung, Record-high adsorption capacities of polyaniline-derived porous carbons for the removal of personal care products from water, Chemical

Engineering Journal, 352 (2018) 71-78.
[175] J.M. Park, S.H. Jhung, Polyaniline-derived carbons: Remarkable adsorbents to remove atrazine and diuron herbicides from water, Journal of Hazardous Materials, (2020) 122624.
[176] N. Aarab, A. Hsini, A. Essekri, M. Laabd, R. Lakhmiri, A. Albourine, Removal of an emerging pharmaceutical pollutant (metronidazole) using PPY-PANi copolymer: Kinetics, equilibrium and DFT identification of adsorption mechanism, Groundwater for Sustainable Development, (2020) 100416.
[177] H. Qiu, L. Lv, B.-c. Pan, Q.-j. Zhang, W.-m. Zhang, Q.-x. Zhang, Critical review in adsorption kinetic models, Journal of Zhejiang University-SCIENCE A, 10 (2009) 716-724.
[178] Y.S. Ho, G. McKay, A Comparison of Chemisorption Kinetic Models Applied to Pollutant Removal on Various Sorbents, Process Safety and Environmental Protection, 76 (1998) 332-340.
[179] G.W. Kajjumba, S. Emik, A. Öngen, H.K. Özcan, S. Aydın, Modelling of adsorption kinetic processeses - errors, theory and application, in Advanced sorption process applications, IntechOpen, 2018.
[180] M. Sarkar, P.K. Acharya, B. Bhattacharya, Modeling the adsorption kinetics of some priority organic pollutants in water from diffusion and activation energy parameters, Journal of colloid and interface science, 266 (2003) 28-32.
[181] W.J. Weber, J.C. Morris, Kinetics of adsorption on carbon from solution, Journal of the sanitary engineering division, 89 (1963) 31-60.
[182] R.R. Gonte, G. Shelar, K. Balasubramanian, Polymer-agro-waste composites for removal of Congo red dye from wastewater: adsorption isotherms and kinetics, Desalination and Water Treatment, 52 (2014) 77977811.
[183] H. Javadian, Application of kinetic, isotherm and thermodynamic models for the adsorption of Co (II) ions on polyaniline/polypyrrole copolymer nanofibers from aqueous solution, Journal of Industrial and Engineering Chemistry, 20 (2014) 4233-4241.
[184] Q. Liu, H. Yu, F. Zeng, X. Li, J. Sun, X. Hu, Q. Pan, C. Li, H. Lin, Z. min Su, Polyaniline as interface layers promoting the in-situ growth of zeolite imidazole skeleton on regenerated cellulose aerogel for efficient removal of tetracycline, Journal of Colloid and Interface Science, 579 (2020) 119-127.
[185] S. Sahnoun, M. Boutahala, Adsorption removal of tartrazine by chitosan/polyaniline composite: Kinetics and equilibrium studies, International Journal of Biological Macromolecules, 114 (2018) 1345-1353.
[186] Z. Ayazi, Z.M. Khoshhesab, F.F. Azhar, Z. Mohajeri, Modeling and Optimization of Adsorption Removal of Reactive Orange 13 on the Alginate-Montmorillonite-Polyaniline Nanocomposite via Response Surface Methodology, Journal of the Chinese Chemical Society, 64 (2017) 627-639.
[187] D. Sparks, Kinetics of reaction in pure and mixed systems, Soil physical chemistry, 44 (1986) 265-268.
[188] W. Lyu, M. Yu, J. Feng, W. Yan, Highly crystalline polyaniline nanofibers coating with low-cost biomass for easy separation and high efficient removal of anionic dye ARG from aqueous solution, Applied Surface Science, 458 (2018) 413-424.
[189] F. Mashkoor, A. Nasar, Polyaniline/Tectona grandis sawdust: A novel composite for efficient decontamination of synthetically polluted water containing crystal violet dye, Groundwater for Sustainable Development, 8 (2019) 390-401.
[190] E. Igberase, P. Osifo, A. Ofomaja, The adsorption of copper (II) ions by polyaniline graft chitosan beads from aqueous solution: Equilibrium, kinetic and desorption studies, Journal of Environmental Chemical Engineering, 2 (2014) 362-369.
[191] M.-R. Huang, H.-J. Lu, W.-D. Song, X.-G. Li, Dynamic Reversible Adsorption and Desorption of Lead Ions Through a Packed Column of Poly(m-phenylenediamine) Spheroids, Soft Materials, 8 (2010) 149-163.
[192] K. Haitham, Removal of Methyl Orange from Aqueous Solutions Using TiO2 Photocatalyst, Polyaniline Adsorbent and the Combined TiO2-Polyaniline System, in, 2014.
[193] Y. Yang, Z. Xiong, Z. Wang, Y. Liu, Z. He, A. Cao, L. Zhou, L. Zhu, S. Zhao, Super-adsorptive and photo-regenerable carbon nanotube based membrane for highly efficient water purification, Journal of Membrane Science, 621 (2021) 119000.
[194] Z. Komeily-Nia, J.-Y. Chen, B. Nasri-Nasrabadi, W.-W. Lei, B. Yuan, J. Zhang, L.-T. Qu, A. Gupta, J.L. Li, The key structural features governing the free radicals and catalytic activity of graphite/graphene oxide, Physical Chemistry Chemical Physics, 22 (2020) 3112-3121.
[195] Z. Komeily-Nia, L.-T. Qu, J.-L. Li, Progress in the Understanding and Applications of the Intrinsic Reactivity of Graphene-Based Materials, Small Science, n/a 2000026.
[196] X. Zhang, X. Fang, J. Li, S. Pan, X. Sun, J. Shen, W. Han, L. Wang, S. Zhao, Developing new adsorptive membrane by modification of support layer with iron oxide microspheres for arsenic removal, Journal of Colloid and Interface Science, 514 (2018) 760-768.

